The use of niobium compounds as catalyst in the production of biofuels: a review

Uso de compostos de nióbio como catalisadores na produção de biocombustíveis: uma revisão

Article Info:
Article history: Received 2021-11-12 / Accepted 2021-01-11 / Available online 2022-01-11
doi: 10.18540/jcecvl8iss1pp13417-01-30e

Júlia De Barros Dias Moreira
ORCID: https://orcid.org/0000-0002-6635-558X
Universidade Federal de Minas Gerais - UFMG, Brazil
E-mail: jbdmoreira@gmail.com

Pedro Henrique Cabral De Souza
ORCID: https://orcid.org/0000-0002-2071-9309
Universidade Federal de Minas Gerais - UFMG, Brazil
E-mail: pedrohc.souza@gmail.com

Igor Cristelli De Sousa Silva
ORCID: https://orcid.org/0000-0002-7525-7586
Universidade Federal de Minas Gerais - UFMG, Brazil
E-mail: igor-css@hotmail.com

Renata Costa Silva Araújo
ORCID: https://orcid.org/0000-0001-9374-7434
Universidade Federal de Minas Gerais - UFMG, Brazil
E-mail: renatasa@ufmg.br

Camila Nunes Costa Corgozinho
ORCID: https://orcid.org/0000-0002-6077-6332
Universidade Federal de Minas Gerais - UFMG, Brazil
E-mail: camilancec@ufmg.br

Daniel Bastos de Rezende
ORCID: https://orcid.org/0000-0002-5638-8249
Universidade Federal de Minas Gerais - UFMG, Brazil
E-mail: daniel@deq.ufmg.br

Resumo
A necessidade de substituir combustíveis fósseis por biocombustíveis não é um tema recente na comunidade acadêmica. Pesquisadores estudam e desenvolvem combustíveis alternativos há décadas e, com isso, combustíveis como o biodiesel e o etanol de primeira geração se consolidaram no mercado. No entanto, esses biocombustíveis de primeira geração competem com a indústria de alimentos, o que afetou sua oferta e preço. Por outro lado, os combustíveis de segunda geração são produzidos a partir de biomassa lignocelulósica e resíduos orgânicos de atividades urbanas e agroindustriais, não competindo com a indústria de alimentos. No entanto, a maioria desses processos ainda não é economicamente viável. Duas das principais contribuições para essa inviabilidade são o baixo desempenho dos processos (baixa conversão da matéria-prima e baixa seletividade dos produtos de interesse) e o alto custo dos catalisadores, que muitas vezes são feitos de metais nobres de pouca disponibilidade. O Nióbio é um metal com diversas aplicações, mas ainda pouco explorado industrialmente como catalisador, apesar de possuir propriedades interessantes para essa finalidade. Este artigo de revisão compila trabalhos envolvendo o uso do nióbio e seus
compostos como catalisador em diversos processos de produção de biocombustíveis, como esterificação, pirólise, liquefação, síntese Fischer-Tropsch, desoxigenação, entre outros. Além da revisão da literatura, este artigo apresenta uma análise crítica a respeito das aplicações de cada processo e tecnologia, bem como das pesquisas desenvolvidas pelos autores.

**Palavras-chave:** Nióbio. Biocombustíveis. Catálise. Biomassa. Desoxigenação. Pirólise.

**Abstract**

The need to replace fossil fuels with biofuels is not a fresh topic in the academic community. Researchers have been studying and developing alternative fuels for decades and, as a result, fuels such as biodiesel and first-generation ethanol have been consolidated on the market. However, these first-generation biofuels compete with the food industry, which affects their supply and price. On the other hand, second-generation fuels are produced from lignocellulosic biomass and organic waste from urban and agro-industrial activities, not competing with the food industry. Nevertheless, most of these processes are still economically unfeasible. Two of the main contributions to this unfeasibility are the low performance of the processes (low conversion of raw material and low selectivity of products of interest) and the high cost of catalysts, which are often made of noble metals of little availability. Niobium is a metal with several applications, but still little explored industrially as a catalyst, despite having interesting properties for this purpose. This review article compiles works involving the use of niobium and its compounds as a catalyst in various biofuel production processes, such as esterification, pyrolysis, liquefaction, Fischer-Tropsch synthesis, deoxygenation, among others. In addition to the literature review, this paper presents a critical analysis regarding the applications of each process and technology as well as the research developed by the authors.

**Keywords:** Niobium. Biofuels. Catalysis. Biomass. Deoxygenation. Pyrolysis.

**1. Introduction**

Biomass is the only sustainable source of organic carbon with the potential to reduce worldwide dependence on fossil fuels, in a scenario of increased energy demand, global warming, and greenhouse gas emissions (P. Wang et al., 2020). Currently, biodiesel and ethanol are the consolidated and commercially available biofuels. Although their use contributes to reducing CO₂ emissions, both fuels have limitations regarding their use in blends with fossil fuels due to the presence of oxygen in their compositions (Moreira et al., 2020). In addition, biodiesel and ethanol, as they are currently produced, are considered first-generation biofuels, which means that their production directly impacts the production and price of food, for using land for planting or inputs that could be used in food production (Havlík et al., 2011). On top of that, the industries in Brazil use methanol synthesized from non-renewable sources in the biodiesel production process for economic and technical reasons, even though the country is a large producer of ethanol from sugarcane.

Second-generation biofuels are produced from lignocellulosic biomass, agro-industrial waste, and organic urban waste. Consequently, its production does not impact the food market (Havlík et al., 2011). Second-generation biofuels production process is similar to the operation of an oil refinery in many ways. Thus, the concept of biorefinery emerges. What distinguishes the processes involving biorefineries from those present in oil refineries are the high concentration of oxygen and the different carbon chains. In the case of biorefineries, several thermochemical and catalytic processes have been studied for the treatment and upgrading of raw materials from renewable sources, aiming at the production of biofuels (Kang et al., 2020). Among them, we can mention the gasification and synthesis of Fischer-Tropsch and thermochemical processes such as pyrolysis and liquefaction followed by hydrodeoxygenation processes (Gollakota et al., 2018; Zuorro et al., 2020).

The employed catalyst is a fundamental factor for the viability of these processes. To produce hydrocarbons from lignocellulosic biomass, for example, it is necessary the cracking of natural
polymers (lignin, cellulose, and hemicellulose) and deoxygenation of cracking products. Cracking reactions are catalyzed by acidic sites on heterogeneous catalysts, while hydrogenation and deoxygenation reactions are catalyzed mainly by metallic sites (Moreira et al., 2020). Regarding that, tailored catalysts with these desired functionalities appear as alternative to perform different reactions simultaneously and to improve both yield selectivity of biofuel production processes. Niobium compounds may carry out these two steps simultaneously.

In this context, several niobium compounds have been studied as catalysts in the production of biofuels worldwide. This is due to their unique acidic and redox properties, and their stability (Kang et al., 2020). This review article presents several possibilities for the use of niobium in its various forms as a catalyst in the production of bioproducts, especially liquid biofuels.

2. Niobium

Niobium (Nb) is a rare, soft, ductile metal at ambient temperature. It has a high melting point (2468 °C) and good corrosion resistance (Grill & Gnadenberger, 2006). In its metallic form, niobium is grey, but it develops a bluish tinge if exposed to air for long periods (Alves & Coutinho, 2015). Niobium has great mechanical properties, being one of the lightest refractory metals, with a density of only 8.57 g.cm\(^{-1}\), presenting a high strength-to-weight ratio, good tensile strength, and high elasticity modulus (Alves & Coutinho, 2015; Ayanda & Adekola, 2011).

Niobium has been applied as an alloying element, often in small proportions, to improve mechanical and chemical properties such as strength, corrosion resistance, superconductivity, heat resistance, and others (Bach, 2009; Nikishina et al., 2014). The most common use for Nb is in the manufacturing of high-strength low-alloy (HSLA) steel from Fe-Nb alloys, accounting for up to 90 % of total global production (Mackay & Simandl, 2014; Nikishina et al., 2014). These alloys, which usually contain 0.02–0.05 % Nb, are widely employed in applications requiring lighter and more resistant steels, such as in oil and gas pipelines, in platforms for oil exploration in deep waters, in the shipping industry, in the construction sector and in the auto industry (Alves & Coutinho, 2015; Bach, 2009). Niobium is also widely used in the composition of superalloys, materials designed to perform under high temperature applications, which are commonly used in nuclear reactor cores, rocket parts, and jet engine components (Alves & Coutinho, 2015; Bach, 2009). In recent years, however, great attention has been given to the application of niobium-based catalysts in processes to obtain biofuels (Gonçalves et al., 2011; Reguera et al., 2004; P. Wang et al., 2020).

2.1 Niobium in the world

More than 96% of all reserves of niobium are accumulated in pyrochlores ([Ca,Na]:Nb\(_2\)O\(_4\)O\(_6\)OH,F) and only 4% accumulate in columbites ([Fe, Mn]Nb\(_2\)O\(_6\)) and columbite-tantalites in granites, pegmatites, and placers (Mackay & Simandl, 2014). According to the 2017 Mineral Summary published by the Brazilian National Mining Agency, Brazil accounts for 93.1% of global niobium production and 98.8% of total niobium reserves (DNPM, 2017). Meanwhile, Canada holds shares of 6.7% and 1.2% of global niobium production and reserves respectively. Less representative Nb deposits can be found in Australia, Finland, Russia, among other countries (DNPM, 2017; Nikishina et al., 2014). The European Commission classifies niobium as a critical raw material considering its great importance for the modern economy and the strong dependence on new suppliers (EC, 2020).

Mine production and demand on niobium have increased greatly throughout the 21st century, mostly driven by infrastructural investments in emerging economies, among which China stands out (Alves & Coutinho, 2015; Mackay & Simandl, 2014). Global technological advancement also plays an important role in the growing niobium demand, given that many modern projects and processes require materials with increasingly noble properties. World mine production quickly escalated from 23,600 tons of Nb in 2000 to 63,000 tons in 2010, and once again to 97,000 tons in 2019. In the year 2020, due to the economical reflexes of the Sars-Cov-2 pandemic, niobium mine production retreated to 78,000 tons (Mineral Commodity Summaries, 2021; USGS, 2001, 2010,
2.2 Niobium in Brazil

Brazil is by far the world’s greatest niobium producer and the owner of the largest Nb reserve. Mineable niobium reserves in Brazil are in the states of Minas Gerais, Amazonas, Goiás and Rondônia. In Minas Gerais, the main reserves, whose mining rights are held by the Brazilian Metallurgy and Mining Company (CBMM) are found in the city of Araxá, with a measured reserve of 742 Mt pyrochloride ore. In Goiás, the main reserves are in the cities of Catalão and Ouvidor, administered by China Molybdenum (CMOC), with a measured reserve of 82.3 Mt of pyrochlorine ore. In Amazonas, in the municipality of Presidente Figueiredo, the Pitinga deposit stands out with a measured reserve of 108.2 Mt of columbite ore, while Rondônia’s reserves are less significant. The mineral content varies on average from 0.21% to 2.85% of Nb₂O₅. Brazil exported 87% of its Fe-Nb alloy production in 2016, generating a US$ 1.3 billion revenue, while the other 13% was directed to the domestic market (Alves & Coutinho, 2015; DNPM, 2017; USGS, 2011).

Although very economically beneficial and crucial for the world’s technological and infrastructural needs, Brazilian niobium mining has been raising some concerns regarding its environmental impact. A niobium Life Cycle Assessment has been the focus of a case study conducted in Brazil (Alves & Coutinho, 2019). The authors highlight the small product/waste ratio on Nb mining due to the low average niobium concentration on the ore. Therefore, an extremely strict waste management policy must be employed to mitigate the damage caused by the niobium mining and processing industries, especially due to the potential radiological hazard of the waste. A long-term prediction of non-processed waste radioactivity of the Catalão mine has been developed, and radiological hazard indices found were higher than the reference values or the global average (El Hajj et al., 2019). This fact raises some important concerns since the Brazilian authorities have shown special interest in Nb mining.

3. Niobium compounds catalysts and their properties

Niobium has been used in catalytic systems in the form of oxides, phosphates, and various modified formulations as support, as a promoter, or as the active phase (Guerrero-Pérez, 2020). In the last years, mainly due to their acidic and redox properties, the niobium-based catalysts have been studied for several different reactions, such as alcohol dehydration (Hilda Gomez Bernal et al., 2015; Catrinck et al., 2017; Gabriel et al., 2020; C. García-Sancho, Agirrezaabal-Telleria, et al., 2014; C. García-Sancho, Rubio-Caballero, et al., 2014; Molina et al., 2015; Tirsoaga et al., 2021), hydrolysis (Campisi et al., 2018; Carniti et al., 2016; Catrinck et al., 2020; Maciel et al., 2020; Nogueira et al., 2020), oxidation (Cecchi et al., 2018; Chagas et al., 2013; Ding et al., 2020; Oliveira et al., 2012; Tran et al., 2019; Wasalathanthri et al., 2019; Wolski, 2020), esterification and transesterification (Câmara & Aranda, 2011; Deshmane et al., 2010; Cristina García-Sancho et al., 2011; Gonçalves et al., 2011; Hoekman et al., 2012; Miranda et al., 2011; Rezende et al., 2019; Singh et al., 2019), isomerization (Carniti et al., 2016; Kitano et al., 2012; Nogueira et al., 2020; Scaldaferrì & Pasa, 2019a, 2019b; Wei et al., 2019), and photocatalytic reactions (Costa et al., 2020; Hashemzadeh et al., 2014; Moraes et al., 2020; Raba-Paéz et al., 2020). In the literature, the niobium compounds most used as catalysts are niobium pentoxide, niobic acid, and niobium phosphate.

3.1 Niobium Pentoxide and Niobic Acid

Niobium pentoxide (niobia - Nb₂O₅) and hydrated niobium oxide (niobic acid - Nb₂O₅.nH₂O) present remarkably strong acidic properties which are very interesting for catalytic applications (Nico et al., 2016). The acid character of niobium oxides is attributed to the presence of both Brønsted and Lewis sites. When compared to niobia, the hydrated niobium oxide presents superior acid properties, mainly due to the presence of protonic sites (Brønsted acid sites) generated by the incorporation of water molecules. On the other hand, Lewis acidity is related to the presence
of oxygen vacancies and structural flexibility of the system (Kreissl et al., 2017; Nowak & Ziolek, 1999). Regarding the structure of niobium oxides, the Brønsted acidity is associated with the presence of slightly distorted NbO$_6$ structures as well as NbO$_7$ and NbO$_8$ structures. Moreover, highly distorted NbO$_6$ octahedra, tetrahedral NbO$_4$, and NbO$_5$ sites are related to Lewis sites (Maurer, 1992; Nowak & Ziolek, 1999; Wachs et al., 2003). Additionally, previous studies have been showing that niobium oxides can maintain their acidic features even in the presence of water and, consequently, maintain their catalytic activity in aqueous systems or reactions with production of water (Dai et al., 2017; Nakajima et al., 2011; Omata & Nambu, 2020).

The final properties and the crystallization behaviour of niobium pentoxides are mainly dependents on the synthesis method and thermal treatments applied (Nico et al., 2016). The niobium pentoxide and niobic acid can exist in the amorphous phase but they start to crystallize at about 500 °C. Thermal treatment processes over 500 °C also result in the decreasing of acidic properties of these compounds, as a consequence of the decrease in the surface area and the transformation of Brønsted sites into Lewis sites due to the elimination of water molecules, as proposed in Figure 1 (Chai et al., 2007; Lebarbier et al., 2012; Nowak & Ziolek, 1999). Furthermore, these oxides generally present low surface area, being the mesoporous, nano-structured, and supported Nb$_2$O$_5$ materials an alternative to improve the morphological and surface properties (Cristina García-Sancho et al., 2011; Kang et al., 2020; Ziolek, 2003).

![Figure 1 - Proposed oxygen vacancy/Lewis acid site formation via Brønsted acid site removal in the form of water. Reproduced with permission from ref. (Kreissl et al., 2017). Copyright (2020) American Chemical Society](image)

Another important characteristic of niobium pentoxide is its reducible character which makes it presents the SMSI (strong metal support interaction) effect, when used as support of transition metals. The SMSI can affect the catalytic performance by improving or worsening it due to geometric or electronic changes (Z. Chen et al., 1984; Nowak & Ziolek, 1999; Sousa et al., 2017).

3.2 Niobium Phosphate

The potential of transition metal phosphates to be applied in catalytic processes has been addressed in the literature (Lin & Ding, 2013). The niobium oxide phosphate, most known as niobium phosphate (NbOPO$_4$), has similar properties to niobium oxides, such as Brønsted and Lewis acidity, redox properties, and water tolerance. However, NbOPO$_4$ presents some advantages such as higher acid strength and better thermal stability, which enables the maintenance of its properties and amorphous character even after thermal treatments (Carniti et al., 2016; Florentino et al., 1992; Nowak & Ziolek, 1999).

Generally, niobium phosphate presents a lamellar structure, in which neutral layers composed of distorted NbO$_6$ octahedra connected by tetrahedral PO$_4$ are interacting by hydrogen bonding. The interlamellar space existing between the layers enables the occlusion of neutral molecules, such as water (Figure 2) (Reguera et al., 2004; Ziolek, 2003). The Brønsted acidity of niobium phosphate is associated with the presence of P-OH and Nb-OH groups. P-OH groups present stronger acidity when compared to Nb-OH, justifying the superior acid strength reported to NbOPO$_4$ when compared to niobium oxides. On the other hand, Lewis acidity is associated with the unsaturated Nb$^{5+}$ sites (Hilda Gómez Bernal et al., 2019; Kang et al., 2020).
Figure 2 - Scheme of the lamellar structure of NbOPO$_4$.nH$_2$O on a plane. Reproduced from ref. (Reguera et al., 2004). (CC BY-NC 4.0).

4. Biofuels

In the following sections, the utilization of niobium compounds as catalysts in the production of several different types of biofuels is provided, including both first and second generations routes.

4.1 Biodiesel

Biodiesel, a worldwide-consolidated biofuel, has been sold in blends with petroleum diesel. It is a mixture of alkyl esters usually obtained by the transesterification of triacylglycerols, deriving from vegetable or residual oil or animal fat, with a short-chain alcohol in the presence of an alkaline or acid catalyst (Hoekman et al., 2012). Currently, the first-generation biodiesel is the most produced and commercialized, being obtained mainly from soybean and palm oils. Non-edible and microalgae oils can also be used as feedstock, resulting in second and third-generation biofuels, respectively (Singh et al., 2019). The alkaline transesterification reaction, which is the most used industrially, requires the use of noble triacylglycerols, with very low levels of water and free fatty acids. Otherwise, the saponification reaction takes place, consuming the catalyst and the raw material and making it difficult to purify the products (Gonçalves et al., 2011). To circumvent this limitation, it is possible to esterify acid oils using heterogeneous acid catalysts, as a preliminary step. Alternatively, the use of heterogeneous catalysts facilitates the recovery of the catalyst and its reuse (Cristina García-Sancho et al., 2011). Furthermore, biodiesel production via esterification is more flexible in terms of raw material purity but it is less used for economic reasons (Gonçalves et al., 2011).

Niobium-silicate molecular sieves were tested as catalysts in the production of biodiesel via transesterification of sunflower oil and methanol. The catalysts were produced from the impregnation of niobium oxalate in silica MCM-41 followed by calcination and by structural incorporation of niobium in silica MCM-41 during the synthesis stage. The results have shown a direct relation between the catalyst acidity and biodiesel yield. After 4 hours of reaction in a 12:1 methanol/oil molar ratio at 200 °C, a 95 % biodiesel yield was achieved over the catalyst produced from the impregnation of MCM-41 with 8 wt% of Nb$_2$O$_5$. Additional tests were performed with simulated degraded oils, prepared by mixing sunflower oil with different amounts of water and oleic acid. The results have shown that the presence of water has a negative effect on biodiesel production, whilst the presence of free fatty acids in concentrations up to 2.2 wt% did not affect considerably
Esterification reactions of free fatty acids were conducted using niobium oxide as a catalyst (79.8 wt% Nb$_2$O$_5$ and 19.6 wt% water; surface area of 180 m$^2$.g$^{-1}$). The reactions were carried out with anhydrous ethanol and 4 wt% hydrated ethanol in a 6:1 ethanol/free fatty acid and 20 wt% catalyst. The results indicated high conversions of stearic, palmitic, and lauric acids. Conversions from free fatty acids to alkyl esters at 200 °C with hydrated ethanol were between 78 to 84 %. Under the same conditions, conversions were between 73 and 77 % with anhydrous ethanol. The authors concluded that the influence of hydrated ethanol in the thermodynamic properties can be attributed to different dissociation constants of the carboxylic acids associated with stabilization of the carboxylic anion by water (Câmara & Aranda, 2011).

One of the disadvantages of biodiesel is its higher freezing point, which limits its application in cold climate regions. To improve the biodiesel performance at low temperatures, a mesoporous catalyst based on gallium and niobium (Ga-Nb) mixed oxide was synthesized, characterized, and tested in isomerization reactions of methyl oleate, one of the main components of biodiesel. Both gallium and niobium oxides have acid and redox activities, important properties for catalytic isomerization and dehydrogenation reactions, respectively. The batch reactions were conducted at 220 °C and autogenous pressures. The reaction produced molecules with methyl and ethyl branches, dehydrogenated diolefinic compounds, methyl palmitoleate, methyl palmitate, among other compounds, showing the isomerization and dehydrogenation activities of the tested catalysts. Oleic acid was also produced by the hydrolysis of methyl oleate due to the residual presence of water or surface hydroxyl groups (Deshmane et al., 2010).

There are also reports on the applications of niobium in the production of biodiesel via a biocatalytic process in the literature. Brazilian researchers have used Candida rugosa Lipase (CRL) immobilized in hydrated niobium oxide as a catalyst in the transesterification of babassu almond oil, a palm tree found in northeastern Brazil. The oil consists of 60-70 % saturated fatty acids, mainly lauric (C12) and miristic (C14). The authors have observed that the niobium oxide support played an important role by increasing the enzyme’s thermal stability, according to results obtained by thermogravimetry. The transesterification reactions were carried out with ethanol, propanol, and butanol. Reasonable conversions (79.35 %) were observed only with butanol due to its lower polarity, which is responsible for maintain a minimum amount of water in the enzyme and, consequently, its catalytic activity (Miranda et al., 2011).

The effect of calcination temperature on niobium phosphate properties and catalytic performances was evaluated by Rade et al. (2019). Samples of commercial niobium phosphate were calcined at different temperatures (300, 350, 400, 450, 500, and 600 °C), characterized, and tested for esterification of oleic acid with ethanol in a continuous ractor. Increasing the calcination temperature has promoted a decrease in surface area and acidity of NbOPO$_4$, as well as in the catalytic activity. However, it can be affirmed that niobium phosphate is thermally stable, mainly when compared to niobic acid, since its surface area and acidity have decreased considerably only after calcination at 600 °C. The catalyst prepared by calcination at 300 °C presented the best performance for esterification (250 °C, ethanol:oleic acid molar ratio of 6:1, 0.3 g of catalyst, and flow rate of 0.3 mL/min) due to its greater surface area, and higher acidity and thermal stability (Rade et al., 2019).

As mentioned before, alkaline homogeneous transesterification is the more consolidated route due to its technical and economic advantages. However, this route demands a raw material with low free fatty acids content (FFA), as well as low water content, properties often found in edible and noble oils, increasing the costs, and affecting the food market. In an approach to overcome this challenge, our research group developed a way to reduce the acidity of macauba oil by the re-esterification reaction between the free fatty acids and glycerol, in the presence of NbOPO$_4$. The use of an inorganic catalyst aims to reduce the reaction temperature, avoiding thermal degradation of the oil. A sample of macauba oil, with initial acidity of 43.90 wt%, was treated using excess glycerol (2:3 glycerol/FFA), 235 °C, with nitrogen flux, for 80 minutes. After the reaction, the
acidity was reduced to 0.8 wt%. The biodiesel produced using the treated oil, by alkaline homogeneous transesterification, presented high ester content (98.4 %) (Rezende et al., 2019).

In summary, niobium-based catalysts have been tested for biodiesel synthesis reactions, via acid esterification or transesterification, and have presented great potential for converting even non-edible oils with high acidity. Additionally, niobium compounds have been applied as catalysts in further reactions related to biodiesel production, such as isomerization and re-esterification, showing their versatility regarding different applications and types of reactions. Besides the conventional niobium oxide and niobium phosphate, novel niobium-based materials, such as mixed oxides and Nb$_2$O$_5$.nH$_2$O-supported enzymes, were proposed and open the way for developing more complex catalysts to be applied in further conversion routes.

4.2 Second-generation ethanol

Second-generation ethanol, which is produced from lignocellulosic biomass residue, is a promising alternative because, unlike its first-generation counterpart, its raw material does not compete with crops. However, the production route is more complex since pretreatment steps are necessary prior to the fermentation process (dos Santos et al., 2016). The first step consists of a structure modifying pretreatment, which enables the dissociation of the lignocellulosic complex, the reduction of its crystallinity, and the increase of the cellulose surface area, preparing the feedstock for the subsequent hydrolysis step. The hydrolysis is performed via an enzymatic route and produces the fermentable sugars (Haghighi Mood et al., 2013).

The structure modifying pretreatment technique depends both on the substrate composition and on the enzymatic hydrolysis step, which are related to the chosen enzyme and sugar release patterns. However, acidic pretreatment is the most used, as it has proven to be effective in a wide variety of lignocellulosic materials (Mosier, 2005).

The use of niobium pentoxide as an acid catalyst for switchgrass (Panicum virgatum) pretreatment was evaluated, given its acidic character. Pretreatment consisted of adding an amount of catalyst (0.25–1 g/g of switchgrass) in a solution of 6 g of biomass diluted in 90 ml of deionized water. The mixture underwent mechanical stirring (400 rpm) for predetermined times and temperatures. Then, it underwent enzymatic hydrolysis processes for 72 h and 168 h. The authors’ objective was to measure hydrolysis conversion of glucan and xylan, which were present in lignocellulosic biomass pretreated with Nb$_2$O$_5$, into fermentable sugars, such as glucose and xylose. The highest glucose yields from glucan hydrolysis (77.51 %) were those of the switchgrass pretreated with 0.25 grams of catalyst per gram of biomass (120 min, 60 °C, 168 h reaction time). Maximum xylose conversion (28.9 %) was obtained from hydrolysis pretreated with 0.625 grams of catalyst per gram of biomass of pretreated (75 min, 60 °C, 72 h). Switchgrass treatment with niobium catalyst showed results comparable to other acid treatments concerning the conversion of glucose by enzymatic hydrolysis. Conversion to xylose, on the other hand, was below average. In addition, the Nb$_2$O$_5$ catalyst had good reusability, being used in four experiments without significant losses (Ansanay et al., 2014). Given that about 18 – 20 % of the total projected cost for the organic production of second-generation ethanol is attributed to the pretreatment stage (Haghighi Mood et al., 2013), the reusability of Nb$_2$O$_5$ has great potential for savings.

To the best of our knowledge, the work presented above is the only one in the literature describing the utilization of Nb-based compounds as catalysts in the lignocellulosic biomass pretreatment step. The results obtained and the common high performance of these compounds in acid-dependent reactions show that niobium catalysts have great potential to be used in the pretreatment steps of second-generation ethanol production. In this regard, it can be affirmed that there is a gap of studies about this utilization of niobium catalysts which can be addressed in future research.
4.3 Drop-in biofuels

Drop-in biofuels are liquid biohydrocarbons chemically similar to fossil fuels. This type of biofuels have the potential to fill the operational gaps left by the use of oxygenated fuels and can be used in existing structures, such as engines, turbines, and tanks, without the need for adaptations, in addition to being the only technically viable alternative to replace fossil aviation kerosene (Gutiérrez et al., 2017; Karatzos et al., 2017). Among the various processes reported and studied for the conversion of biomass into hydrocarbons, catalytic hydroprocessing can be highlighted. This process is one of the stages present in several of the drop-in biofuel synthesis routes, as shown in Figure 3 (Arun et al., 2015; Gutiérrez et al., 2017).

![Figure 3 - Main drop-in biofuel production routes reported in the literature from different types of biomass.](image)

The catalytic hydroprocessing comprises several reactions that allow the conversion of oxygenated compounds into hydrocarbons. This process is usually carried out at high temperatures (up to 350 °C), high H₂ pressures, and in the presence of a catalyst. The main reactions that occur during hydroprocessing are hydrogenation, deoxygenation, cracking, and isomerization reactions (Pattanaik & Misra, 2017). Specific catalytic sites, such as metallic, and/or hydrogenating, acidic and/or basic sites are required to catalyze the reactions described above. In this regard, the catalysts most used and studied in the production of drop-in biofuels are noble metals, transition metals, sulfides/carbides/nitrides/phosphides, and bifunctional catalysts containing metallic sites and acidic sites (Arun et al., 2015; S. Chen et al., 2019). In addition, approaches that reduce the H₂ dependence of the process have also been studied, in which the use of noble metal catalysts is less reported, giving rise to alternative catalysts (Rogers & Zheng, 2016).

Conversion of esters and fatty acids into hydrocarbons: Studies in the literature have reported the use of niobium compounds associated with noble and transition metals as catalysts in the synthesis of hydrocarbons from different fatty materials.

Transition and noble metals (Ir, Re, Pd, Pt, Cu, and Ni) supported on Nb₂O₅ were tested to obtain hydrocarbons (HCs) from the catalytic deoxygenation of lauric acid. The authors reported that Pt/Nb₂O₅ was the most active catalyst under the test conditions (8 bar H₂, 180 °C, 4 h), achieving
the highest conversion and yield of hydrocarbons. To understand the influence of support on catalytic activity, the authors tested Pt catalysts supported on other metal oxides and found that Pt/Nb2O5 had the best performance, proving the influence of niobium oxide on the final catalytic activity of the material. The catalyst characterization identified the presence of Lewis sites since the niobium oxide was treated at a temperature of 500 °C prior to the synthesis of the final catalyst. This thermal treatment enables the conversion of Brønsted acid sites into Lewis sites, by the dehydration of the oxide. The authors have proposed that the H2 is dissociated on the platinum surface and the carbonyl group of the reactants is activated in the acidic sites of Lewis of the NbO4 species. Therefore the Pt/Nb2O5 catalyst’s high efficiency on hydrodeoxygenation of fatty compounds was justified by the synergistic effect between the metal and the oxide (Kon et al., 2014).

Similar results were reported in a study on the activity of a palladium catalyst supported on NbOPO4. Hydrodeoxygenation of palm oil and soy oil over Pd/NbOPO4 (180 °C, 30 bar of H2, and 24 h) resulted in 83.9 and 85.1 wt% of hydrocarbons in the diesel range, respectively. The catalyst characterizations after the reduction step showed the presence of Brønsted and Lewis acid sites. The strong Lewis acidity reported was attributed to the occurrence of reduction of the support, generating oxygen vacancies in its structure and exposing strong acidic Lewis sites (Nb+5), which are capable of adsorbing and activating the triglyceride ester group. This characteristic combined with the ability of Pd to activate H2 characterize a cooperative effect between the metallic and acidic sites of the catalyst, which is responsible for the high catalytic efficiency of Pd/NbOPO4 for the hydrodeoxygenation of oils in mild conditions (Q. Xia et al., 2016).

The use of niobium compounds without the presence of additional metals as catalysts to produce hydrocarbons from esters and fatty acids has also been reported in the literature. Brazilian researchers tested the deoxygenation of oleic acid in the presence of three niobium-based catalysts: NbOPO4 calcined at 623 K; Nb2O5, obtained from heat treatment of H2Nb2O7 at 623 K; and H3PO4/Nb2O5, prepared by wet impregnation of a solution of H3PO4 in Nb2O5 support. Reactions were conducted in a continuous flow fixed bed reactor at atmospheric pressure under N2 flow and 350 °C. Table 1 shows a summary of the characterizations of the three catalysts used. The greatest deoxygenations were obtained with NbOPO4, with conversion up to 82 %. As can be observed in Table 2, the largest fraction of diesel was also obtained with the NbOPO4. These results indicate that there is considerable difference in the catalytic properties of Nb2O5 and NbOPO4, mainly related to the presence of strong acid sites, which were found in higher amounts in the NbOPO4 sample (Reguera et al., 2004). In this regard, the strong acidity seems to have an important role in the deoxygenation reaction.

Table 1 - Properties of niobium-based catalysts (Reguera et al., 2004).

| Catalyst | Surface area (m².g⁻¹) | Pore volume (cm³.g⁻¹) | Average pore diameter (Å) | Total acidity (µmol NH₃.g⁻¹) |
|----------|-----------------------|-----------------------|--------------------------|-----------------------------|
| NbOPO4   | 119                   | 0.31                  | 71.0                     | 143                         |
| Nb2O5    | 115                   | 0.15                  | 41.7                     | 529                         |
| H₃PO₄/Nb2O5 | 78                   | 0.13                  | 51.5                     | 811                         |

Table 2 - Distribution of products expressed in the hydrocarbon range (Reguera et al., 2004).

| Catalyst      | C₆-C₁₂ (Gasoline) | C₁₄-C₁₈ (Diesel) | C₁₉-C₂₂ (Lubricant) |
|---------------|-------------------|------------------|---------------------|
| No catalyst   | -                 | 33.12            | -                   |
| NbOPO4        | 0.72              | -                | 65.12               |
| Nb₂O₅         | 0.11              | 4.56             | 91.29               |
| H₃PO₄/Nb₂O₅  | 1.77              | 21.32            | 72.79               |

The great catalytic performance of niobium phosphate was also reported by Scaldaferri et al. (2019), who has investigated the use of NbOPO4 in the hydroprocessing of soybean oil. For the best
reaction conditions described in the work (10 bar H2, 350 °C, and 5 h), the authors obtained 97% yield in hydrocarbons, with high selectivity to linear and branched alkanes, cycloalkanes, and aromatic compounds. The authors attributed the occurrence of isomerization, cyclization, and aromatization reactions to the presence of Brønsted and Lewis acid sites in the NbOPO4. The calcination of NbOPO4 at low temperature (200 °C) enables the maintenance of Brønsted sites. Considering the importance of the presence of isoalkanes and aromatics in mixtures to be used as aviation biofuel, the product obtained in this work has the potential to be applied in aviation biokerosene formulations, as well as green diesel (Scaldaferri & Pasa, 2019a). In another work by the same research group, niobium phosphate performance for the production of alkanes from soybean oil in the absence of external hydrogen supply was studied and compared with other catalysts. Table 3 presents a summary of the results obtained in this work. The NbOPO4 catalyst presented the best performance in the tested reaction conditions, with a high yield in linear and branched alkanes. The maximum content of hydrocarbons obtained in the liquid product was about 90 wt% for the 5 h batch reaction at 10 bar of N2, 25 wt% catalyst and 350 °C. The product synthesized under these conditions presented a variety of hydrocarbons with carbon chains in the range of gasoline, kerosene, and green diesel. Regarding the great results presented, this process has a high potential for the production of drop-in biofuels from soybean oil, with the great advantage of using an inert gas instead of H2 (Scaldaferri & Pasa, 2019b).

Table 3 - Liquid products yield and HC content in liquid products obtained from catalyst screening reactions (15 wt% catalyst, 10 bar N2, 350 °C, 5 h, 500 rpm) (Scaldaferri & Pasa, 2019b).

| Catalyst          | Liquid products yield (wt%) | HC content in liquid products (%) |
|-------------------|----------------------------|----------------------------------|
| No catalyst       | 83                         | 47                               |
| NbOPO4            | 91                         | 86                               |
| FCC zeolite       | 88                         | 68                               |
| HBeta zeolite     | 50                         | 31                               |
| ZSM-5 zeolite     | 70                         | 16                               |
| Pd/C              | 76                         | 99                               |

Considering the results presented so far, it can be concluded that the catalytic activity of niobium compounds for the deoxygenation of fatty compounds is directly associated with their acidic properties. Lewis acidity together with the catalytic properties of metals, such as Pd and Pt, characterizes a synergistic effect that favors the achievement of high yield and selectivity in hydrocarbons, even at low temperatures. The cooperation between the Brønsted and Lewis sites, on the other hand, seems to be responsible for the excellent catalytic performance of niobium phosphate without the addition of other metals, even in processes in the absence of H2. However, there is a need for studies that go deeper into the characterization of the chemical properties of pure niobium phosphate and into the role of each property of this material during hydropyrolysis reactions.

Conversion of lignocellulosic biomass derivatives into hydrocarbons: Lignocellulosic biomass is mainly composed of three biopolymers: lignin, cellulose, and hemicellulose. These biopolymers have chemical and structural differences between them, with lignin formed by phenylpropane units that are bonded mainly through ether and carbon-carbon bonds, while cellulose and hemicellulose are formed by simple sugars monomers. To be transformed into hydrocarbons with properties suitable for use as drop-in biofuels, these biopolymers need to undergo innumerable chemical processes composed of different reactions that generally are carried out in the presence of catalysts (Centi et al., 2011; F. Wang et al., 2021).

Xia et al. (2014) have studied the deoxygenation of furans obtained from aldol condensation of furfurals using palladium supported on different supports as catalysts. From the catalytic tests with Pd/NbOPO4, Pd/Al2O3, Pd/H-ZSM-5, Pd/Nb2O5, and with a physical mixture of Pd/Al2O3 with NbOPO4, it was observed that catalysts with niobium had a better catalytic performance. The authors
obtained 100% deoxygenated liquid product, composed of more than 90% of octane, starting from furfural acetone and under mild conditions (170 °C, 2.0 MPa H₂) in a fixed bed reactor with a Pd/NbOPo₄ catalyst. The catalyst remained active for 256 h, with no reduction in catalytic activity. Considering the similarity between Pd/NbOPo₄ and Pd/Nb₂O₅ catalytic activities, the catalysts characterizations results, and the data obtained by the DFT calculations (Density Functional Theory), it was proposed that the NbOₓ species, present in both catalysts play an important role in breaking the C-O bond of the furan ring, accordingly to results reported in other studies presented in this review. Other products of the aldolic condensation of furfural and hydroxymethylfurfural with acetone also resulted in the production of alkanes from reactions with Pd/NbOPO₄ catalyst. The great results obtained can be explained by the oxophilic and acidic character of these niobium-based catalysts, which are responsible for the C-O cleavage and dehydration reactions, respectively (Q.-N. Xia et al., 2014).

In a later work by the same research group, the direct production of alkanes from furfural and 2-methylfuran (2-MF) was reported. It was developed a one-pot method with a Pd/NbOPo₄ multifunctional catalyst to perform simultaneously the following reactions: hydroalkylation/alkylation (HAA), condensation of furfural with 2-MF, and hydrodeoxygenation (HDO) (Figure 4). Initially, the authors studied the steps of HAA-condensation and HDO separately. A series of acid catalysts were tested for HAA-condensation, with niobium phosphate being the most active with a 97.4% conversion to furfural, 96.5% conversion to 2-MF, and 93.3% yield in carbon, in the optimal conditions (80 °C, 5 h, and 2-MF/furfural ratio of 2.05). Furthermore, NbPO₄ did not show a considerable loss in its catalytic activity even after five reuses in the optimal reaction conditions. For the HDO stage of HAA-condensation products, the authors compared the catalytic activities of metals Pd, Pt, Ru, and Ni, all supported in NbOPo₄, and reported the best results for the Pd/NbOPo₄ catalyst, with conversion and alkane yield of about 100% (200 °C, 4 MPa of H₂, for 12 h). Unlike the reuse results obtained for the NbOPo₄ on the HAA reactions, Pd/NbOPo₄ catalyst presented considerable loss of catalytic activity after the fifth use in the HDO stage, due to the formation of carbon deposits on the catalyst surface. However, a catalyst regeneration step by calcination at 500 °C for 3 h resulted in the recovery of catalytic performance. From the results obtained for the HAA and HDO reactions done separately, the one-pot reaction was carried out in two stages. The first was carried out under the optimum conditions determined for the HAA-condensation and the second under the optimal conditions for HDO. From this method, the authors obtained a liquid product without the presence of oxygenated compounds and with an 89.1% yield of alkanes in the diesel range (Q. Xia et al., 2017). Regarding its multifunctional character and the results presented so far, the Pd/NbOPo₄ catalyst appears to be a potential catalyst to perform sequential reactions to synthesize biohydrocarbons via the one-pot method from furfurals and furans.

*Figure 4 - Furfural/2-MF HAF reaction scheme followed by HDO of the formed furan intermediate (Q. Xia et al., 2017). Copyright Wiley-VCH Verlag GmbH & Co. KGaA. Reproduced with permission.*
In a similar approach, Samikannu et al. (2020) reported the synthesis and catalytic tests of a new acid catalyst of niobium phosphate dispersed in mesoporous silica (NbOPO$_4$/SBA-15) and a bifunctional catalyst with palladium (Pd/NbOPO$_4$/SBA-15). The objective was to obtain alkanes in the bio-jet fuel range from the conversion of furan compounds derived from biomass by a two-step process: hydro-alkylation/alkylation (HAA) and hydrodeoxygenation (HDO). From the results presented in Table 4, it is observed that the NbP-C/SBA-15 catalyst had superior activity and stability for the C-C coupling between 2-methylfuran and several carbonyl compounds, from the HAA reaction when compared to other conventional acid catalysts. In the tested reaction conditions, this catalyst had a 983 h$^{-1}$ turnover frequency (TOF) and 92.6 % yield on HAA products. The authors justified the superior performance of this material based on its acidic characteristics, such as the greater ratio between the number of acidic Brønsted and Lewis sites and greater strength of the acidic sites, as well as from the uniform distribution and exposure of these acidic sites on the surface of mesoporous support (Samikannu et al., 2020).

### Table 4 - Acid properties and reaction results of the catalysts tested for HAA (Samikannu et al., 2020).

| Catalyst          | (M+S)/W$^a$ | B/L$^b$ | TOF (h$^{-1}$) | HAA products yield (%) |
|-------------------|-------------|---------|----------------|------------------------|
| NbP-D/SBA-15      | 3.42        | 0.63    | 462            | 94                     |
| NbP-C/SBA-15      | 11.6        | 1       | 983            | 92.6                   |
| NbP-B/SBA-15      | 4.05        | 0.95    | 510            | 85.8                   |
| NbP-A/SBA-15      | 3.42        | 0.48    | 434            | 83.1                   |
| Nb$_2$O$_5$/SBA-15| 1.03        | 0.37    | 166            | 45.4                   |
| NbP-bulk          | 5.62        | 5.5     | 397            | 97                     |
| H-ZSM-5           | 1.16        | -       | 18             | 3                      |
| Al-MCM-41         | 3.4         | 0.41    | 99             | 69                     |
| SiAl              | 4           | -       | 25             | 22                     |

$^a$ M = Medium sites; S = Strong sites; W = Weak sites; values determined by ammonia (NH$_3$)TPD.

$^b$ B = Brønsted sites; L = Lewis sites; values determined by the infrared results of the catalysts adsorbed with pyridine.

Tests for the HDO of HAA products over bifunctional catalysts with Pd also showed the potential of the synthesized materials to produce HCs from the furan adduct. Table 5 summarizes the results obtained from these reactions. Pd/NbOPO$_4$/SBA-15 catalysts had excellent performance, with 100 % conversion and up to 100 % hydrocarbon yield. For the HDO reaction, the authors concluded that the presence of medium/weak acid sites promoted the opening of the furan ring from the breakdown of the C-O bond more selectively, favoring the formation of branched HCs. On the other hand, the presence of strong Brønsted sites favored the simultaneous breaking of C-O and C-C bonds, producing lighter and linear compounds. In this sense, silica-supported niobium phosphate catalysts have adequate acidic and textural properties, resulting in an excellent catalytic performance for the tested reactions, being a potential alternative for the conversion of biomass into bio-jet fuel (Samikannu et al., 2020). Regarding the presented results, this work shows the potential of dispersing niobium-based compounds over supports as an approach to tailor and control the properties of the final material, such as acidity and morphology.

Many studies on the catalytic deoxygenation of phenolic monomers, compounds present in bio-oils derived from lignin, using catalysts with niobium compounds have been reported in the literature. Barrios et al. (2018) studied the activity of Pd catalysts supported on SiO$_2$ and Nb$_2$O$_5$ for the hydrodeoxygenation of phenol. The authors reported the superior performance of the Pd/Nb$_2$O$_5$ catalyst, which had a reaction rate up to 90 times higher than the Pd/SiO$_2$ catalyst, presenting greater selectivity to benzene. From the catalysts and products characterization results, it was explained that the greater selectivity for deoxygenated products obtained for Pd/Nb$_2$O$_5$ is due to the Nb$^{4+}$/Nb$^{5+}$ oxophilic sites on the support. This characteristic guarantees a strong interaction between the Nb
cations with the phenol oxygen, favoring a reaction mechanism that furthers the hydrogenation of the phenyl tautomer carbonyl and dehydration of the alcohol formed, producing benzene. For the Pd/SiO₂ catalyst, the absence of the oxophilic character results in the preference for hydrogenation of the aromatic ring. The authors also concluded that, when reduced at high temperatures, the catalyst Pd/Nb₂O₅ presented a decrease in the catalytic activity. This decrease was explained by the formation of NbOₓ particles covering the metal particles of Pd, characterizing the strong metal-support interaction (SMSI) (Barrios et al., 2018). These findings show how the properties of Nb₂O₅-supported metal particles catalysts can be affected by thermic treatments.

Table 5 - Conversions and yields obtained for the HDO reactions of the HAA product (2-methyl-5-(1-(5-methylfuran-2-yl) butyl) furan). Conditions: 50 mg of catalyst, 1.25 mmol of substrate, 3 ml of cyclohexane, 50 bar H₂, 200 °C, and 12 h (Samikannu et al., 2020).

| Catalyst                     | Conversion (%) | Yield (%) |
|------------------------------|---------------|-----------|
|                              |               | C14 HCs   | Total HCs | Oxygenated |
| Pd/NbP-A/SBA-15              | 100           | 52.6      | 77.9      | 20.1       |
| NbP-B/SBA-15                 | 100           | 62.6      | 100       | 0          |
| NbP-C/SBA-15                 | 100           | 58.8      | 98.4      | 1.6        |
| Pd/NbP-bulk                  | 100           | 53.8      | 100       | 0          |
| Pd/Nb2O5/SBA-15              | 100           | 32        | 35        | 65         |
| Pd/H-ZSM-5                   | 100           | 67.6      | 79.7      | 20.3       |
| Pd/Al-MCM-41                 | 100           | 68.8      | 73.3      | 26.7       |
| Pd/C                         | 100           | 0         | 0         | 100        |
| Pd/SiAl                      | 100           | 0         | 0         | 100        |

In another work by the same research group, performances of palladium catalysts supported on niobium oxide, niobium phosphate, and silica were studied for the hydrodeoxygenation of different model compounds, such as phenol, m-cresol, anisol, and guaiacol, as well as for the hydrodeoxygenation of a real substrate, the pine wood pyrolysis vapor. The reaction mechanisms for each catalyst and each molecule were described and discussed, as shown in Figure 5. It is demonstrated that the support and substrate functional groups influence the type of predominant mechanism. The authors reported that Pd/Nb₂O₅ catalyst had the greatest deoxygenation activity for all tested molecules. It was justified by its oxophilic character, and by the smaller size of catalyst metallic particles.

In addition, from the Pd/Nb₂O₅ stability study for phenol and guaiacol conversion, the authors observed a decrease in catalytic activity with an increase in reaction time. The catalyst deactivation occurred by the decrease in the metal dispersion and the accumulation of oxygenated intermediates adsorbed on the catalytic oxophilic surface. Based on the results of reactions with pyrolytic pine vapors, the authors highlighted the better performance of catalysts with niobium supports (Pd/Nb₂O₅ and Pd/NbOPO₄) on reducing the content of oxygenates even for real substrates (Teles et al., 2018).
Figure 5 - Mechanisms of HDO reactions of substituted phenolic compounds on Pd catalysts supported on Nb$_2$O$_5$, NbOPO$_4$, and SiO$_2$. Reproduced from ref. (Teles et al., 2018). Copyright (2018), with permission from Elsevier.

Niobium oxide and micro-mesoporous carbon (MC) composites supporting Ru catalysts were tested for phenol hydrodeoxygenation in a biphasic system using decaline and water as solvents under mild reaction. Under optimal reaction conditions (250 °C, 2 bar of H$_2$, Ru/5Nb$_2$O$_5$-5MC catalyst), the authors reported 100 % conversion of phenol and 80 % selectivity to benzene. The excellent catalytic performance was justified by synergistic effects between the Ru metallic particles, responsible for the hydrogenation/dehydrogenation reactions, and the Nb$_2$O$_5$-MC support acid and oxophilic sites. These sites are responsible for adsorbing the oxygenated compounds and activating the substrate’s C-O bonds. Furthermore, the authors highlighted the importance of the amphiphilic character of composite support, which ensures emulsion stabilization of the biphasic system and, consequently, greater selectivity for benzene, since the presence of water in the system limits the occurrence of hydrogenation of the aromatic ring. Therefore, the use of the biphasic system and the proposed catalyst appears as a promising alternative for the valorization of lignin derivatives, from its conversion into hydrocarbons with potential for application as biofuels (C. Zhang et al., 2019).

Ma et al. (2019) studied the performance of Ru catalysts supported on different niobium materials to obtain hydrocarbons from the depolymerization and hydrodeoxygenation of lignin. The supports used were niobic acid, niobium phosphate, and layered niobium oxide. For reactions using lignin as a substrate (250 °C, 0.5 MPa of H$_2$, for 20 h) excellent results were obtained mainly for the Ru/Nb$_2$O$_5$-Layer catalyst, with 99.1 % molar yield in hydrocarbons and selectivity of 88.0 % in aromatic hydrocarbons. To understand better the network of reaction over the tested catalysts, the authors have performed additional experiments using the model compound p-cresol as substrate. The authors have concluded that the better performance of the Ru/Nb$_2$O$_5$-Layer catalysts to produce aromatics hydrocarbons is due to its higher density of Lewis acid sites and its lower metallic particle size (Ma et al., 2019).
The modification of a conventional carbon-supported Pt catalyst (Pt/C) with niobium using the Atomic Layer Deposition (ALD) method, resulting in a new catalyst (NbOx - Pt/C), has efficiently increased the selectivity towards toluene on m-cresol hydrodeoxygenation reaction. The authors reported that niobium modification on Pt/C catalyst increased process selectivity on toluene from 68 % to 95 %. From adsorption and spectroscopy studies using m-cresol and model catalysts, it was possible to conclude that the interaction at the interface between NbOx and Pt particles is responsible for stabilizing the Nb cations in a partially reduced state, which act as sites oxophilic for the adsorption of hydroxyl oxygen present in the substrate, as shown in Figure 6. The authors emphasized that this type of adsorption is different from that commonly reported for Pt catalysts, in which there is the adsorption of the aromatic ring with the metal surface, facilitating hydrogenation of the ring to produce saturated hydrocarbons. In this regard, it was concluded that the greater selectivity to toluene for the catalyst NbOx - Pt/C is justified mainly by the adsorption mechanism favored by this material, which induces C-O bond cleavage and hinders aromatic ring hydrogenation (T. Chen & Vohs, 2020).

Figure 6 - Scheme of adsorption and reaction of m-cresol on the surface of NbOx/Pt model catalyst. Reproduced with permission from ref. (T. Chen & Vohs, 2020). Copyright (2020) American Chemical Society.

Ru catalysts supported on various materials containing niobium, such as phosphate and niobia, were also synthesized and tested for the production of cyclohexane from hydrodeoxygenation of anisole, in a dense and complete work developed by Zhao et al. (2020). Ru/NbOPO4 catalyst had superior performance on initial catalytic tests (170 °C, 1 MPa of H2, 2h of reaction), with 99.3 % conversion of anisole and 94.1 % selectivity in cyclohexane, indicating the high efficiency of this catalyst for deoxygenation even under mild reaction conditions. Regarding the catalyst characterization results, the authors attributed the greater activity of the Ru/NbOPO4 catalyst to the presence of NbO4 tetrahedral structures and distorted NbO6 octahedrons, which act as Lewis acid sites and are responsible for methoxy group adsorption and CO bond activation. To evaluate the best activity of Ru/NbOPO4 catalyst, catalytic tests were carried out using other model compounds, including ethers and aromatic phenols. The authors reported excellent catalytic performance of this material on lignin-derived compounds into HCs under reaction temperatures varying between 100 and 170 °C. Conversion and selectivity results are presented in Table 6 (H. Zhao et al., 2020).

Additionally, Ru/NbOPO4 catalyst was tested for a real bio-oil upgrading (170 °C, 5 MPa H2, 10 h), resulting in a reduction in oxygen content from 91.8 % to 6.9 % and an 88.2 % alkanes yield, confirming its great performance for this extremely complex substrate. The authors state that the excellent results obtained under mild conditions characterize the high potential of the Ru/NbOPO4 catalyst for converting lignocellulosic biomass into liquid biofuels (H. Zhao et al., 2020). It is important to note that these results are different from those described in previously presented articles, in which materials with Nb2O5 had greater Lewis acid character and, consequently, greater selectivity for aromatic compounds. This observation indicates the great influence of catalysts preparation methods in their final properties.
Table 6 - Conversion and selectivity of HDO reactions with Ru/NbOPO₄ catalyst using different substrates (H. Zhao et al., 2020).

| Substrate | Temperature and reaction time | Conversion (%) | Main product | Main product selectivity (%) |
|-----------|-----------------------------|----------------|--------------|-----------------------------|
| 1         | 170 °C, 2h 100 °C, 14h     | 99.3 97.1     | 94.1         | 93.7                        |
| 2         | 170 °C, 2h 100 °C, 14h     | 94.8 94.0     | 98.8         | 74.5                        |
| 3         | 170 °C, 3h 100 °C, 14h     | 99.4 94.9     | 84.2         | 61.7                        |
| 4         | 170 °C, 3h 100 °C, 15h     | 99.8 99.7     | 87.8         | 71.8                        |
| 5         | 170 °C, 3h 120 °C, 14h     | 99.9 97.0     | 91.8         | 88.6                        |
| 6         | 170 °C, 3h 120 °C, 14h     | 99.9 99.9     | 95.7         | 85.3                        |
| 7         | 170 °C, 3h 120 °C, 14h     | 98.5 99.7     | 95.6         | 58.6                        |
| 8         | 170 °C, 3h 120 °C, 14h     | 99.7 93.6     | 95.0         | 70.7                        |

Reactional conditions: 0.1 g of substrate, 0.1 g de solvent (decan), 1 MPa of H₂, dodecan internal standard

*a* Undecane was the solvent.

*b* Tridecan was the internal standard.
According to what was exposed in this item, it can be concluded that the niobium compounds used as catalysts for the conversion of different types of biomolecules have interesting properties and, consequently, excellent results for obtaining hydrocarbons. In general, the high catalytic performance of these materials is directly related to the acid properties of niobium materials. The balances between strong, medium, and weak acid sites and between Lewis and Brønsted sites are very important to develop versatile and suitable materials for each type of reaction, substrate, and desired product. Furthermore, Lewis acidity seems to be an important property to guarantee the conversion of phenolic compounds, by activating the C-O bond, and to improve the properties of the dispersed metallic particles.

Another trend research approach that has been reported in the literature as described above is the development of composite niobium-based materials. The association of niobium compounds with versatile materials widely used in the catalytic process such as silica and carbon materials is a promising way to control the chemical and morphological properties of the final catalyst, such as acidity, oxophilic character, and porosity. Therefore, this approach can result in very specific catalysts with desired activity, performance, and stability.

**Fischer-Tropsch:** Fischer-Tropsch (FT) reaction produces hydrocarbons from syngas (carbon monoxide and hydrogen) (Dry, 2002). This synthesis method is of great importance since it enables the production of liquid fuels from a feedstock that can be obtained from biomass through thermochemical processes, such as pyrolysis and gasification. For the FT reaction, obtaining high molecular weight hydrocarbons (C5+) is desired, while the production of large proportions of methane is indicative of a suboptimal process.

The FT reaction is typically catalyzed by iron or cobalt catalysts (Diehl & Khodakov, 2009). The catalyst active phase is usually supported on a porous oxide for mechanical and chemical stability. Niobia (Nb$_2$O$_5$)-supported cobalt catalyst has gained substantial interest due to its high selectivity towards C5+. Selectivity of 49% has been reported on a FT synthesis under mild conditions (260 °C, 1 bar, 5 wt% Co, H$_2$/CO = 2) at which a C5+ product distribution of only 11% was obtained by synthesis using alumina supported catalyst (Silva et al., 1993). The superior performance of Nb$_2$O$_5$ as a support material is attributed to its partial reduction and its strong interaction with cobalt, characterizing the SMSI effect (Mendes et al., 2006; Silva et al., 1993). Under high pressure conditions, Nb$_2$O$_5$ supported cobalt catalyst presented a C5+ selectivity of up to 90% (220 °C, 20 bar, 5 wt% Co, H$_2$/CO = 2) (den Otter & de Jong, 2014). In the same study, alumina-supported catalysts required four times more cobalt (25 wt%) to achieve comparable results in terms of CO conversion, proving the superior activity of cobalt when supported on Nb$_2$O$_5$. However, crystalline niobia presents a low porosity dense structure, which limits the maximum cobalt loading by impregnation. Multiple impregnations to obtain catalysts with cobalt content higher than 6 wt% usually result in larger cobalt particles, reducing the cobalt-niobia interaction and subsequently decreasing catalyst activity and C5+ selectivity (Hernández et al., 2017). In another study, to combine the positive C5+ selectivity of niobia with the high porosity of SiO$_2$, niobia-modified silica was prepared and applied as support for cobalt catalyst. Cobalt loadings up to 21 wt% were obtained, resulting again in a more active catalyst with no selectivity compromise (den Otter et al., 2016).

Fischer-Tropsch catalysts are often promoted with small amounts of noble metals and transition metal oxides to raise the reducibility and dispersion of the active phase particles, hinder catalyst deactivation, increase the number of hydrogen activation sites, and enhance the reactivity of active sites (Diehl & Khodakov, 2009). Niobium has been studied as a promoter for FT synthesis over Co/SiO$_2$ catalyst with great results (Huang et al., 2017). Huang et al. (2017) reported a considerable increase in CO conversion from 70.7% to 94.1% due to the promotion with a 1.57 wt% Nb loading. C5+ selectivity was also increased from 85.6% to 89.1%, while the catalyst activity increased 57%. The presence of niobium as a promoter can significantly weaken the metal-support interaction, accelerating the reduction of cobalt oxides to a more active Co hexagonal close-packed phase (Huang et al., 2017, 2018). Furthermore, NbO$_3$ species decreased BET average pore
volume, favoring a greater cobalt dispersion and promoting the formation of small cobalt particles. The effect of niobium promotion on iron and cobalt catalysts supported on carbon nanotubes has also been studied. For both active metals, the Nb loading with the best results was 0.4 wt%. In the iron-based catalysts experiments, Nb promotion resulted in a 38% increase in CO conversion and a 67% increase in C5+ selectivity, while increments of 62% and 39% were reported in the cobalt-based catalyst study on CO conversion and C5+ selectivity, respectively. Metal dispersion was enhanced in both studies by Nb promotion, while metal reducibility was increased only in the iron-based catalyst report (Ali et al., 2011, 2012).

In summary, we can conclude that the utilization of niobia (Nb2O5) as support or promoter in the Fischer-Tropsch process has been widely reported in the literature, presenting great performance and potential for improving conversion and C5+ selectivity. However, there is a lack of studies with further niobium compounds, such as niobium phosphate and novel Nb-modified materials.

4.4 Thermochemical processes for the production of bio-oil and biocrude

The thermochemical processes used in the production of biofuels are processes that use temperature and, in some cases, pressure to produce bio-oil or biocrude, biogas, and biochar from carbon-rich organic matter. The generated products can be used directly as an energy source or used as raw material for biofuel production. These processes do not require catalysts. But, many times, catalysts are used to improve selectivity or to improve some property of interest. This paper addresses pyrolysis, hydropyrolysis, and liquefaction processes.

Pyrolysis and hydropyrolysis: Pyrolysis is a thermochemical process that occurs in the absence of an oxidizing atmosphere upon heat, transforming the raw material (usually biomass) into biochar, bio-oil, and pyrolytic gas (F. Wang et al., 2021).

Chinese researchers studied the effects of Nb2O5 as a catalyst for fast pyrolysis of Enzyme Hydrolyzed Lignin (EHL), a by-product of the bioethanol industries that contains about 80% lignin. The Nb2O5 was prepared using a modified hydrothermal method and had a greater distribution of the mesopores at 3.1 nm, a surface area of 113 m².g⁻¹, and a pore volume of 0.14 cm³.g⁻¹. Furthermore, the catalyst presented Bronsted and, predominantly, Lewis acid sites. To understand the Nb2O5 influence on pyrolysis products distribution, several catalyst/lignin ratios were studied, and it was observed that higher proportions of catalyst result in smaller amounts of oxygenated compounds and larger amounts of monocyclic aromatic hydrocarbons (94% of formed hydrocarbons were aromatic). The temperature was another studied parameter (500 to 650 °C). The reaction conducted at a temperature of 650 °C and 9:1 catalyst/lignin ratio had the highest aromatic hydrocarbon yield. In addition to these observations, it has also been reported that higher proportions of Nb2O5 limit the number of solids and polycyclic aromatic hydrocarbons formed and, consequently, prevent the formation of char/coke over the catalyst. In summary, the authors concluded that niobia is a promising catalyst for fast-pyrolysis of high lignin content feedstocks for production of aromatic hydrocarbons (Li et al., 2020).

The influence of the utilization of two acid catalysts, zeolite ZSM-5 and niobic acid HY-340, on the pyrolysis of industrial Kraft lignins was studied and reported by Santana Junior et al. (2018). The results have shown that the utilization of both catalysts increased the hydrocarbons selectivity when compared to the pyrolysis with no catalyst. The use of ZSM-5 has promoted the formation of aromatic hydrocarbons while the niobic acid has produced mainly linear hydrocarbons, such as tetra and pentadecane. The major hydrocarbons selectivity was achieved using niobic acid, with a lignin-catalyst ratio of 1:10, at 550 °C, using the lignin type 1. The percentage area of hydrocarbons identified for this reaction was 92%. The authors attributed the good performance of niobic acid to its already known capacity to favour the C-O bond cleavage and to its acid character, important characteristics to promote deoxygenation reactions (Santana et al., 2018).

The same catalysts, ZSM-5 and HY-340, were also tested in the hydropyrolysis of industrial Kraft lignins. Like conventional pyrolysis, hydropyrolysis is a process of thermal degradation but occurs in a reaction atmosphere moderately pressurized by hydrogen. The presence of hydrogen
inhibits the formation of undesirable aromatic polynuclear compounds, olefins, and free radicals, which normally are responsible for decrease the quality of the produced bio-oil. On the other hand, an efficient and stable catalyst for this process has yet to be developed and the high hydrogen consumption leads to high operating costs. The addition of niobic acid strongly influenced the increase in the hydrocarbons selectivity, whose maximum formation represented 93% of area (1:5 lignin-catalyst ratio, 650 °C), whilst during the non-catalytic hydropyrolysis of lignin there was no formation of hydrocarbons (Santana Junior et al., 2019). Therefore, we can affirm that, regarding the difference between the selectivity of hydrocarbons between pyrolysis and hydropyrolysis using niobic acid as catalyst is negligible, the niobic acid present great performance even at inert atmosphere and is a potential catalyst to be used in the conversion of biomass into hydrocarbons in the absence of hydrogen.

Our research group has been working in the field of pyrolysis, mainly using urban solid residues as raw material. The pyrolyzes are performed in three different types of reactors: fixed bed reactor, continuous fluidized bed reactor, and solar slow pyrolizer. Up to now, the reactions were carried out without catalyst. However, regarding the potential and great catalytic performance presented by niobium composites in catalytic pyrolysis, the group intends to start the tests using them as catalysts, aiming for the simultaneous deoxygenation of the products.

**Liquefaction**: Biomass liquefaction has been studied since the 1920s and, in recent years, the scientific interest about it has impressively grown due to environmental issues (Hou et al., 2021). Liquefaction can be seen as a combination of pyrolysis and hydrolysis processes since it combines thermal chemistry and the utilization of a liquid solvent under temperatures between 200-400 °C. It depolymerizes, cracks, and partially deoxygenates the lignocellulosic material producing the biocrude, a complex organic liquid, that can be converted into biofuels by a catalytic upgrading process (Lange, 2018). When the solvent used is water, the process is known as hydrothermal liquefaction, an interesting alternative for the conversion of biomasses with higher water content, such as microalgae (S. Zhang et al., 2019).

Even though the liquefaction process does not necessarily require the use of a catalyst, the current focus of liquefaction research is on the utilization of catalysts able to improve the biocrude yields and to perform deoxygenation/upgrading reactions simultaneously (Scarsella et al., 2020). This objective can be achieved by applying acid-base catalysis, which can perform depolymerization and hydrolysis reactions, and also metallic catalysts, which can perform the biocrude deoxygenation, such as has been reported in the literature (Araújo et al., 2020; Duan & Savage, 2011; Govindasamy et al., 2019; J. Zhang et al., 2013; B. Zhao et al., 2021).

Xia et al. (2016) have published interesting work on the conversion of wood sawdust into alkanes over a multifunctional Pt/NbOPO₄ catalyst under mild conditions (190 °C, 5 MPa H₂, 20 h) using cyclohexane as solvent. The catalyst was able to depolymerize the lignocellulosic complex and convert cellulose, hemicellulose, and even the lignin fractions into hexane, pentane, and alkyl cyclohexanes, respectively, and to achieve yields up to 28.1 wt% of alkanes in a one-pot process. From additional experiments performed with other catalysts and with model molecules, the authors justified the superior performance of Pt/NbOPO₄ based on the synergistic effect between Pt, NbOₓ species, and the Brønsted and Lewis acidic sites on the support. The NbOₓ sites combined with acid properties were capable to promote C-O bond cleavage and the hydrogenolysis of C-O-C ether bond of lignin. Furthermore, stability tests were also performed showing the good recyclability and stability of the catalyst. Hence the presented one-pot process over Pt/NbOPO₄ catalyst seems to be a potential alternative for biofuels production from raw biomass (T. Chen & Vohs, 2020).

The same research group has published another work reporting the hydrothermal liquefaction of lignin into arenes over a Ru/Nb₂O₅ catalyst. Several catalysts (Ru/Nb₂O₅, Ru/ZrO₂, Ru/Al₂O₃, Ru/TiO₂, Ru/HZSM-5, and Ru/C) were tested for the lignin liquefaction (0.1 g lignin, 0.2 g catalyst, 15 mL water, 250 °C, 0.7 MPa H₂, 20 h). The Ru/Nb₂O₅ catalyst presented the best performance, with a near-quantitative carbon yield, with total mass yield of 35.5 wt% for liquid hydrocarbons, and monoaromatics hydrocarbons selectivity of 71 wt%. The authors have shown that the proposed
catalyst could perform the depolymerization of lignin followed by hydrodeoxygenation, via the cleavage of C\textsubscript{aromatic}-OH bonds, which is a hardly achieved mechanism and is responsible for the direct production of arenes from phenolic monomers over the Ru/Nb\textsubscript{2}O\textsubscript{5} catalyst. From the results obtained by inelastic neutron scattering (INS) and density functional theory (DFT) calculations, the authors have concluded that the dissociation energy for C\textsubscript{aromatic}-OH bonds in phenolics is significantly decreased upon adsorption on the Ru/Nb\textsubscript{2}O\textsubscript{5} catalyst, justifying its unique catalytic performance and selectivity to arenes (Figure 7). In summary, the authors claim that the proposed hydrothermal liquefaction of lignin over Ru/Nb\textsubscript{2}O\textsubscript{5} is a promising approach for the production of valuable aromatic hydrocarbons (Shao et al., 2017).

Figure 7 - (a) Calculated energies for phenol adsorption (that is, a combination of deprotonation of C\textsubscript{aromatic}–OH to form phenoxide bound to the vacant surface metal sites and the formation of surface –OH groups) and disassociation of the C–O bonds upon adsorption over Nb\textsubscript{2}O\textsubscript{5}, ZrO\textsubscript{2}, Al\textsubscript{2}O\textsubscript{3} and TiO\textsubscript{2}. (b) Views of the corresponding DFT-optimized structural models for the phenoxide bound on Nb\textsubscript{2}O\textsubscript{5}(001), ZrO\textsubscript{2}(010), Al\textsubscript{2}O\textsubscript{3}(110) and TiO\textsubscript{2}(101) surfaces. Reproduced from ref. (Shao et al., 2017) (CC BY 4.0).

In the light of the above and considering their general properties and great catalytic performance, niobium compounds appear as an interesting option for further studies to fill the gap on the use of heterogeneous catalysts in the liquefaction route. Our research group has been studying the lignocellulosic biomass liquefaction process to obtain biopolyols for the synthesis of polymers, especially polyurethanes. The lignin, crude glycerol, castor oil, liquid from the cashew nut bark, curauá fiber (Ananas erectifolius), and pulp and endocarp of the macauba have already been studied to obtain biopolyols to synthesize foams and polyurethane coatings. In these studies, biomass liquefaction occurred from solvolysis reactions by polyhydric alcohols using acid catalysis, which showed good results. Mainly due to its acid character, niobium composites will be tested in future studies.
5. Conclusion

Herein we have provided a dense overview of the utilization of niobium compounds as catalysts in several conversion processes for the production of biofuels. The utilization of niobium-based catalysts was proposed for the conversion of different types of raw materials, such as vegetable oils, lignocellulosic biomasses, renewable platform molecules, and residual feedstocks, through different processes into several types of biofuels, such as biodiesel, second-generation ethanol, and drop-in biofuels.

In summary, the conversion routes over niobium-containing catalysts have much potential to be applied in the production of biofuels, since the great majority of the works about it have obtained outstanding results. It can be concluded that the excellent catalytic performance of niobium catalysts is most related to their unique physical-chemical properties and versatility. They generally present redox and acid properties, with both Brønsted and Lewis sites. The Lewis acidity is mainly related to the presence of unsaturated niobium cations that acts as oxophilic sites and favours the adsorption and activation of C-O bonds, which are one of the main linkages presented in the lignocellulosic complex and in other biomass-derived compounds. Moreover, the versatility of niobium catalysts lays down in the dependence of their properties on the precursor and methods applied during their synthesis and also on the used thermal pretreatments. Hence it is possible to tailor the desired properties to the final catalyst, such as acidity, crystallinity, and surface properties based on the synthesis methods.

The most reported niobium-containing compounds were the niobium pentoxide, also known as niobia (Nb2O5), the hydrated niobium pentoxide, most called niobic acid (Nb2O5.nH2O), and the niobium phosphate (NbOPO4). Further niobium-based compounds were also tested for catalytic production of biofuels, such as modified or mixed oxides and composites, and their development seems to be a promising approach to synthesize tailored catalysts with distinct properties. The utilization of niobium materials associated with transition metals, resulting in multifunctional catalysts, was also very reported and presented excellent performance which was mainly associated with synergistic effects between the metallic sites and the acid sites.

Furthermore, the niobium has been standing out mainly when used in the production of biohydrocarbons, the so-called drop-in biofuels. Several works, mainly related to the deoxygenation of phenolic model compounds and the upgrading of raw bio-oils, were reported here, with outstanding selectivity to desired alkanes. In the case of deoxygenation of lignocellulosic-derived compounds, the role of the niobium compounds as catalysts was largely discussed based on the results of several different reactions, characterization techniques, and theoretical methods. Further conversion routes, such as pyrolysis and liquefaction, were also performed over niobium materials but on a smaller amount, despite the great results obtained with niobium compounds-supported noble metals mainly for liquefaction reactions.

In the light of the above, we can highlight some opportunities to develop further works with niobium-based catalysts, as following:

1. The development of tailored niobium composites with unambiguous properties to be applied in very specific processes or reactions;
2. More studies with niobium catalysts in the pretreatment steps of second-generation ethanol production, in a way to improve the results obtained so far;
3. More detailed studies about the application of niobium catalysts in the deoxygenation of fatty compounds in inert atmosphere, considering the great results presented in previous works;
4. Studies about the application in large scale and with real substrates of the proposed process for conversion of lignocellulosic derived compounds into hydrocarbons over the niobium-based catalysts;
5. More studies about thermochemical processes for conversion of solid biomass into liquids alkanes, such as pyrolysis and liquefaction, over different niobium-based catalysts and using...
different types of feedstocks. In the case of the liquefaction route, to understand better the relation between types of solvents and the catalyst used. In addition, studies to check if the processes are scalable and industrially viable.

Acknowledgements

The authors would like to gratefully acknowledge the National Council for Scientific and Technological Development (CNPq) and the Dean of Research of the Federal University of Minas Gerais (Pró-Reitoria de Pesquisa - PRPq da Universidade Federal de Minas Gerais - UFMG).

References

Ali, S., Mohd Zabidi, N. A., & Subbarao, D. (2012). Effect of niobium promoters on iron-based catalysts for Fischer-Tropsch reaction. *Journal of Fuel Chemistry and Technology, 40*(1), 48–53. https://doi.org/10.1016/S1872-5813(12)60006-1

Ali, S., Zabidi, N. A. M., & Subbarao, D. (2011). Development of niobium-promoted cobalt catalysts on carbon nanotubes for Fischer-Tropsch synthesis. *Journal of Natural Gas Chemistry, 20*(6), 659–663. https://doi.org/10.1016/S1003-9953(10)60243-5

Alves, A. R., & Coutinho, A. dos R. (2015). The Evolution of the Niobium Production in Brazil. *Materials Research, 18*(1), 106–112. https://doi.org/10.1590/1516-1439.276414

Alves, A. R., & Coutinho, A. dos R. (2019). Life cycle assessment of niobium: A mining and production case study in Brazil. *Minerals Engineering, 132*(January), 275–283. https://doi.org/10.1016/j.mineng.2018.11.041

Ansany, Y., Kolar, P., Sharma-Shivappa, R. R., & Cheng, J. J. (2014). Niobium oxide catalyst for delignification of switchgrass for fermentable sugar production. *Industrial Crops and Products, 52*, 790–795. https://doi.org/10.1016/j.indcrop.2013.11.044

Araújo, M. F. R. S., Lima, P. C., Cardoso, C. C., & Pasa, V. M. D. (2020). Biocrude production from sugarcane bagasse and ethanol over green catalysts based on shellfish waste. *Journal of Cleaner Production, 277*, 123709. https://doi.org/10.1016/j.jclepro.2020.123709

Arun, N., Sharma, R. V., & Dalai, A. K. (2015). Green diesel synthesis by hydrodeoxygenation of bio-based feedstocks: Strategies for catalyst design and development. *Renewable and Sustainable Energy Reviews, 48*, 240–255. https://doi.org/10.1016/j.rser.2015.03.074

Ayanda, O. S., & Adekola, F. A. (2011). A Review of Niobium-Tantalum Separation in Hydrometallurgy. *Journal of Minerals and Materials Characterization and Engineering, 10*(03), 245–256. https://doi.org/10.4236/jmmce.2011.103016

Bach, D. (2009). *EELS Investigations of Stoichiometric Niobium Oxides and Niobium-based Capacitors*. 210.

Barrios, A. M., Teles, C. A., de Souza, P. M., Rabelo-Neto, R. C., Jacobs, G., Davis, B. H., Borges, L. E. P., & Noronha, F. B. (2018). Hydrodeoxygenation of phenol over niobia supported Pd catalyst. *Catalysis Today, 302*(March), 115–124. https://doi.org/10.1016/j.cattod.2017.03.034

Bernal, Hilda Gómez, Benito, P., Rodríguez-Castellón, E., Galletti, A. M. R., & Funaioli, T. (2019). Synthesis of isopropyl levulinate from furfural: Insights on a cascade production perspective. *Applied Catalysis A: General, 575*, 111–119. https://doi.org/10.1016/j.apcata.2019.02.018

Bernal, Hilda Gomez, Galletti, A. M. R., Garbarino, G., Busca, G., & Finocchio, E. (2015). NbP catalyst for furfural production: FT IR studies of surface properties. *Applied Catalysis A: General, 502*, 388–398. https://doi.org/10.1016/j.apcata.2015.06.031

Câmara, L. D. T., & Aranda, D. A. G. (2011). Reaction Kinetic Study of Biodiesel Production from Fatty Acids Esterification with Ethanol. *Industrial & Engineering Chemistry Research, 50*(5), 2544–2547. https://doi.org/10.1021/ie1005806

Campisi, S., Bennici, S., Auroux, A., Carniti, P., & Gervasini, A. (2018). A Rational Revisiting of
Niobium Oxophosphate Catalysts for Carbohydrate Biomass Reactions. *Topics in Catalysis*, 61(18–19), 1939–1948. https://doi.org/10.1007/s11244-018-0999-x

Carniti, P., Gervasini, A., Bossola, F., & Dal Santo, V. (2016). Cooperative action of Brønsted and Lewis acid sites of niobium phosphate catalysts for cellobiose conversion in water. *Applied Catalysis B: Environmental*, 193, 93–102. https://doi.org/10.1016/j.apcatt.2016.04.012

Catrinck, M. N., Barbosa, P. S., Filho, H. R. O., Monteiro, R. S., Barbosa, M. H. P.,Ribas, R. M., & Teófilo, R. F. (2020). One-step process to produce furfural from sugarcane bagasse over niobium-based solid acid catalysts in a water medium. *Fuel Processing Technology*, 207, 106482. https://doi.org/10.1016/j.fuproc.2020.106482

Catrinck, M. N., Ribeiro, E. S., Monteiro, R. S., Ribas, R. M., Barbosa, M. H. P., & Teófilo, R. F. (2017). Direct conversion of glucose to 5-hydroxymethylfurfural using a mixture of niobic acid and niobium phosphate as a solid acid catalyst. *Fuel*, 210, 67–74. https://doi.org/10.1016/j.fuel.2017.08.035

Cecchi, C. P., Oliveira, H. S., Mauro, B., Liang, Y., & Xu, B. (2007). Sustainable production of acrolein: Gas-phase dehydration of glycerol over Nb2O5 catalyst. *Applied Catalysis A: General*, 454, 88–92. https://doi.org/10.1016/j.apcata.2013.01.007

Chai, S., Wang, H., Liang, Y., & Xu, B. (2007). Sustainable production of acrolein: Gas-phase dehydration of glycerol over Nb2O5 catalyst. *Journal of Catalysis*, 250(2), 342–349. https://doi.org/10.1016/j.jcat.2007.06.016

Chen, S., Zhou, G., & Miao, C. (2019). Green and renewable bio-diesel produce from oil hydrodeoxygenation: Strategies for catalyst development and mechanism. *Renewable and Sustainable Energy Reviews*, 101(December 2018), 568–589. https://doi.org/10.1016/j.rser.2018.11.027

Chen, T., & Vohs, J. M. (2020). Direct Hydrodeoxygenation of m -Cresol to Toluene over Bifunctional NbO x –Pt. *The Journal of Physical Chemistry C*, 124(26), 14253–14261. https://doi.org/10.1021/acs.jpcc.0c03988

Chen, Z., Iizuka, T., & Tanabe, K. (1984). NIOBIC ACID AS AN EFFICIENT CATALYST FOR VAPOR PHASE ESTERIFICATION OF ETHYL ALCOHOL WITH ACETIC ACID. *Chemistry Letters*, 13(7), 1085–1088. https://doi.org/10.1246/cl.1984.1085

Costa, G. P., Rafael, R. A., Soares, J. C. S., & Gaspar, A. B. (2020). Synthesis and characterization of ZnO-Nb2O5 catalysts for photodegradation of bromophenol blue. *Catalysis Today*, 344, 240–246. https://doi.org/10.1016/j.cattod.2019.04.059

Dai, Q.-L., Yan, B., Liang, Y., & Xu, B.-Q. (2017). Water effects on the acidic property of typical solid acid catalysts by 3,3-dimethylbut-1-ene isomerization and 2-propanol dehydration reactions. *Catalysis Today*, 295, 110–118. https://doi.org/10.1016/j.cattod.2017.05.084

den Otter, J. H., & de Jong, K. P. (2014). Highly Selective and Active Niobia-Supported Cobalt Catalysts for Fischer–Tropsch Synthesis. *Topics in Catalysis*, 57(6–9), 445–450. https://doi.org/10.1007/s11244-013-0200-5

den Otter, J. H., Nijveld, S. R., & de Jong, K. P. (2016). Synergistic Promotion of Co/SiO2 Fischer–Tropsch Catalysts by Niobia and Platinum. *ACS Catalysis*, 6(3), 1616–1623. https://doi.org/10.1021/acscatal.5b02418

Deshmane, C. A., Jasinski, J. B., Ratnasamy, P., & Carreon, M. A. (2010). Synthesis and catalytic properties of mesoporous, bifunctional, gallium–niobium mixed oxides. *Chemical Communications*, 46(34), 6347. https://doi.org/10.1039/c0cc01962c
Diehl, F., & Khodakov, A. Y. (2009). Promotion of Cobalt Fischer-Tropsch Catalysts with Noble Metals: a Review. *Oil & Gas Science and Technology - Revue de l’IFP*, 64(1), 11–24. https://doi.org/10.2516/ogst:2008040

Ding, W., Peng, H., Zhong, W., Mao, L., & Yin, D. (2020). Site-specific catalytic activities to facilitate solvent-free aerobic oxidation of cyclohexylamine to cyclohexanone oxime over highly efficient Nb-modified SBA-15 catalysts. *Catalysis Science & Technology*, 10(10), 3409–3422. https://doi.org/10.1039/D0CY00479K

DNPM. (2017). *Departamento Nacional da Produção Mineral. Sumário Mineral 2017.*

dos Santos, L. V., de Barros Grassi, M. C., Gallardo, J. C. M., Prolla, R. A. S., Calderón, L. L., de Carvalho-Neto, O. V., Parreira, L. S., Camargo, E. L. O., Drezza, A. L., Missawa, S. K., Teixeira, G. S., Lunardi, I., Bressiani, J., & Pereira, G. A. G. (2016). Second-Generation Ethanol: The Need is Becoming a Reality. *Industrial Biotechnology*, 12(1), 40–57. https://doi.org/10.1089/ind.2015.0017

Dry, M. E. (2002). The Fischer–Tropsch process: 1950–2000. *Catalysis Today*, 71(3–4), 227–241. https://doi.org/10.1016/S0920-5861(01)00453-9

Duan, P., & Savage, P. E. (2011). Hydrothermal Liquefaction of a Microalga with Heterogeneous Catalysts. *Industrial & Engineering Chemistry Research*, 50(1), 52–61. https://doi.org/10.1021/ie100758s

EC. (2020). *Critical Raw Materials Resilience: Charting a Path towards greater Security and Sustainability.* EUROPEAN COMMISSION.

El Hajj, T. M., Gandolla, M. P. A., da Silva, P. S. C., Torquato, H., & Delboni, H. (2019). Long-term prediction of non-processed waste radioactivity of a niobium mine in Brazil. *Journal of Sustainable Mining*, 18(3), 142–149. https://doi.org/10.1016/j.jsm.2019.04.003

Florentino, A., Cartraud, P., Magnoux, P., & Guisnet, M. (1992). Textural, acidic and catalytic properties of niobium phosphate and of niobium oxide. *Applied Catalysis A: General*, 89(2), 143–153. https://doi.org/10.1016/0926-860X(92)80229-6

Gabriel, C. B., Canhaci, S. J., Borges, L. E. P., & Fraga, M. A. (2020). Aviation biofuel range cycloalkane from renewables: Liquid-phase catalytic conversion of menthol on niobia-supported catalysts. *Fuel*, 277, 118288. https://doi.org/10.1016/j.fuel.2020.118288

García-Sancho, C., Agirrezabal-Telleria, I., Güemez, M. B., & Maireses-Torres, P. (2014). Dehydration of d-xylose to furfural using different supported niobia catalysts. *Applied Catalysis B: Environmental*, 152–153, 1–10. https://doi.org/10.1016/j.apcatb.2014.01.013

García-Sancho, C., Rubio-Caballero, J. M., Mérida-Robles, J. M., Moreno-Tost, R., Santamaría-González, J., & Maireses-Torres, P. (2014). Mesoporous Nb2O5 as solid acid catalyst for dehydration of d-xylose into furfural. *Catalysis Today*, 234, 119–124. https://doi.org/10.1016/j.cattod.2014.02.012

García-Sancho, Cristina, Moreno-Tost, R., Mérida-Robles, J. M., Santamaría-González, J., Jiménez-López, A., & Maireses-Torres, P. (2011). Niobium-containing MCM-41 silica catalysts for biodiesel production. *Applied Catalysis B: Environmental*, 108–109, 161–167. https://doi.org/10.1016/j.apcatb.2011.08.025

Gollakota, A. R. K., Kishore, N., & Gu, S. (2018). A review on hydrothermal liquefaction of biomass. *Renewable and Sustainable Energy Reviews*, 81(August 2016), 1378–1392. https://doi.org/10.1016/j.rser.2017.05.178

Gonçalves, J. D. A., Ramos, A. L. D., Rocha, L. L. L., Domingos, A. K., Monteiro, R. S., Peres, J. S., Furtado, N. C., Taft, C. A., & Aranda, D. A. G. (2011). Niobium oxide solid catalyst: Esterification of fatty acids and modeling for biodiesel production. *Journal of Physical Organic Chemistry*, 24(1), 54–64. https://doi.org/10.1002/poc.1701

Govindasamy, G., Sharma, R., & Subramanian, S. (2019). Studies on the effect of heterogeneous catalysts on the hydrothermal liquefaction of sugarcane bagasse to low-oxygen-containing bio-oil. *Biofuels*, 10(5), 665–675. https://doi.org/10.1080/17597269.2018.1433967

Grill, R., & Gnadenberger, A. (2006). Niobium as mint metal: Production-properties-processing. *International Journal of Refractory Metals and Hard Materials*, 24(4), 275–282.
https://doi.org/10.1016/j.ijrmmhm.2005.10.008
Guerrero-Pérez, M. O. (2020). The fascinating effect of niobium as catalytic promoting agent. *Catalysis Today*, 354, 19–25. https://doi.org/10.1016/j.cattod.2019.04.008
Gutiérrez, A. C., Gómez, Castro, F. I., Lira, Flores, J. A., & Hernández, S. (2017). A review on the production processes of renewable jet fuel. *Renewable and Sustainable Energy Reviews*, 79(October 2016), 709–729. https://doi.org/10.1016/j.rser.2017.05.108
Haghighi Mood, S., Hossein Golfeshan, A., Tabatabaei, M., Salehi Jouzani, G., Najafi, G. H., Gholami, M., & Ardjmand, M. (2013). Lignocellulosic biomass to bioethanol, a comprehensive review with a focus on pretreatment. *Renewable and Sustainable Energy Reviews*, 27, 77–93. https://doi.org/10.1016/j.rser.2013.06.033
Hashemzadeh, F., Rahimi, R., & Ghaffarinejad, A. (2014). Mesoporous nanostructures of Nb2O5 obtained by an EISA route for the treatment of malachite green dye-contaminated aqueous solution under UV and visible light irradiation. *Ceramics International*, 40(7), 9817–9829. https://doi.org/10.1016/j.ceramint.2014.02.072
Havlík, P., Schneider, U. A., Schmid, E., Böttcher, H., Fritz, S., Skalský, R., Aoki, K., Cara, S. De, Kindermann, G., Kraxner, F., Leduc, S., McCallum, I., Mosnier, A., Sauer, T., & Obersteiner, M. (2011). Global land-use implications of first and second generation biofuel targets. *Energy Policy*, 39(10), 5690–5702. https://doi.org/10.1016/j.enpol.2010.03.030
Hernández, M. C., den Otter, J. H., Weber, J. L., & de Jong, K. P. (2017). Crystalline niobia with tailored porosity as support for cobalt catalysts for the Fischer–Tropsch synthesis. *Applied Catalysis A: General*, 548(May), 143–149. https://doi.org/10.1016/j.apcata.2017.07.016
Hoekman, S. K., Broch, A., Robbins, C., Ceniceros, E., & Natarajan, M. (2012). Review of biodiesel composition, properties, and specifications. *Renewable and Sustainable Energy Reviews*, 16(1), 143–169. https://doi.org/10.1016/j.rser.2011.07.143
Hou, Q., Qi, X., Zhen, M., Qian, H., Nie, Y., Bai, C., Zhang, S., Bai, X., & Ju, M. (2021). Biorefinery roadmap based on catalytic production and upgrading 5-hydroxymethylfurfural. *Green Chemistry*, 23(1), 119–231. https://doi.org/10.1039/d0gc02770g
Huang, J., Qian, W., Zhang, H., & Ying, W. (2017). In situ investigation on Co-phase evolution and its performance for Fischer–Tropsch synthesis over Nb-promoted cobalt catalysts. *Catalysis Science & Technology*, 7(23), 5530–5539. https://doi.org/10.1039/C7CY01325F
Huang, J., Qian, W., Zhang, H., & Ying, W. (2018). Influences of ordered mesoporous silica on product distribution over Nb-promoted cobalt catalyst for Fischer-Tropsch synthesis. *Fuel*, 216, 843–851. https://doi.org/10.1016/j.fuel.2017.10.118
Kang, S., Miao, R., Guo, J., & Fü, J. (2020). Sustainable production of fuels and chemicals from biomass over niobium based catalysts: A review. *Catalysis Today*. https://doi.org/10.1016/j.cattod.2020.10.029
Karatzos, S., van Dyk, J. S., McMillan, J. D., & Saddler, J. (2017). Drop-in biofuel production via conventional (lipid/fatty acid) and advanced (biomass) routes. Part I. *Biofuels, Bioproducts and Biorefining*, 11(2), 344–362. https://doi.org/10.1002/bbb.1746
Kitano, T., Shishido, T., Teramura, K., & Tanaka, T. (2012). Brønsted Acid Property of Alumina-Supported Niobium Oxide Calcined at High Temperatures: Characterization by Acid-Catalyzed Reactions and Spectroscopic Methods. *The Journal of Physical Chemistry C*, 116(21), 11615–11625. https://doi.org/10.1021/jp3032429
Kon, K., Onodera, W., Takakusagi, S., & Shimizu, K. (2014). Hydrodeoxygenation of fatty acids and triglycerides by Pt-loaded Nb 2 O 5 catalysts. *Catal. Sci. Technol.*, 4(10), 3705–3712. https://doi.org/10.1039/C4CY00757C
Kreissl, H. T., Li, M. M. J., Peng, Y.-K., Nakagawa, K., Hooper, T. J. N., Hanna, J. V., Shepherd, A., Wu, T.-S., Soo, Y.-L., & Tsang, S. C. E. (2017). Structural Studies of Bulk to Nanosize Niobium Oxides with Correlation to Their Acidity. *Journal of the American Chemical Society*, 139(36), 12670–12680. https://doi.org/10.1021/jacs.7b06856
Lange, J. P. (2018). Lignocellulose Liquefaction to Biocrude: A Tutorial Review. *ChemSusChem*, 11(6), 997–1014. https://doi.org/10.1002/cssc.201702362
Lebarbier, V., Houalla, M., & Onfroy, T. (2012). New insights into the development of Brønsted acidity of niobic acid. Catalysis Today, 192(1), 123–129. https://doi.org/10.1016/j.cattod.2012.02.061

Li, S., Luo, Z., Wang, W., Sun, H., Xie, J., & Liang, X. (2020). Catalytic fast pyrolysis of enzymatic hydrolysis lignin over Lewis-acid catalyst niobium pentoxide and mechanism study. Bioresource Technology, 316, 123853. https://doi.org/10.1016/j.biortech.2020.123853

Lin, R., & Ding, Y. (2013). A Review on the Synthesis and Applications of Mesostructured Transition Metal Phosphates. Materials, 6(1), 217–243. https://doi.org/10.3390/ma6010217

Ma, D., Lu, S., Liu, X., Guo, Y., & Wang, Y. (2019). Depolymerization and hydrodeoxygenation of lignin to aromatic hydrocarbons with a Ru catalyst on a variety of Nb-based supports. Chinese Journal of Catalysis, 40(4), 609–617. https://doi.org/10.1016/S1872-2067(19)63317-6

Maciel, S. T. A., Silva, A. A. L. da, Pedro, Y. G., Silva, C. N. da, Câmara, L. D. T., Araújo, J. M. R. de A., Ribeiro, E. S., Silva, G. F. da, Freitas, L. S., & Aranda, D. A. G. (2020). Kinetics of Soybean Oil Hydrolysis on Niobium Catalysts. Chemical Engineering & Technology, 43(11), 2149–2159. https://doi.org/10.1002/catte.201900609

Mackay, D. A. R., & Simandl, G. J. (2014). Geology, market and supply chain of niobium and tantalum—a review. Mineralium Deposita, 49(8), 1025–1047. https://doi.org/10.1007/s00126-014-0551-2

Maurer, S. (1992). Structural and acidic characterization of niobia aerogels. Journal of Catalysis, 135(1), 125–134. https://doi.org/10.1016/0021-9517(92)90274-L

Mendes, F. M. T., Uhl, A., Starr, D. E., Guimond, S., Schmal, M., Kuhlenbeck, H., Shaiikhutdinov, S. K., & Freund, H.-J. (2006). Strong metal support interaction on Co/niobia model catalysts. Catalysis Letters, 111(1–2), 35–41. https://doi.org/10.1007/s10562-006-0127-6

Mineral Commodity Summaries. (2021). https://doi.org/10.3133/mcs2021

Miranda, M., Urioste, D., Andrade Souza, L. T., Mendes, A. A., & de Castro, H. F. (2011). Assessment of the Morphological, Biochemical, and Kinetic Properties for Candida rugosa Lipase Immobilized on Hydrous Niobium Oxide to Be Used in the Biodiesel Synthesis. Enzyme Research, 2011, 1–10. https://doi.org/10.4061/2011/216435

Molina, M. J. C., Granados, M. L., Gervasoni, A., & Carniti, P. (2015). Exploitation of niobium oxide effective acidity for xylose dehydration to furfural. Catalysis Today, 254, 90–98. https://doi.org/10.1016/j.cattod.2015.01.018

Moraes, N. P. de, Santos, G. S. dos, Neves, G. C., Valim, R. B., Silva Rocha, R. da, Landers, R., Silva, M. L. C. P. da, & Rodrigues, L. A. (2020). Development of Nb2O5-doped ZnO/Carbon xerogel photocatalyst for the photodegradation of 4-chlorophenol. Optik, 219, 165238. https://doi.org/10.1016/j.ijleo.2020.165238

Moreira, J. de B. D., Rezende, D. B. de, & Pasa, V. M. D. (2020). Deoxygenation of Macauba acid oil over Co-based catalyst supported on activated biochar from Macauba endocarp: A potential and sustainable route for green diesel and biokerosene production. Fuel, 269, 117253. https://doi.org/10.1016/j.fuel.2020.117253

Mosier, N. (2005). Features of promising technologies for pretreatment of lignocellulosic biomass. Bioresource Technology, 96(6), 673–686. https://doi.org/10.1016/j.biortech.2004.06.025

Nakajima, K., Baba, Y., Noma, R., Kitano, M., N. Kondo, J., Hayashi, S., & Hara, M. (2011). Nb 2 O 5 ·nH 2 O as a Heterogeneous Catalyst with Water-Tolerant Lewis Acid Sites. Journal of the American Chemical Society, 133(12), 4224–4227. https://doi.org/10.1021/ja110482r

Nico, C., Monteiro, T., & Graça, M. P. F. (2016). Niobium oxides and niobates physical properties: Review and prospects. Progress in Materials Science, 80, 1–37. https://doi.org/10.1016/j.pmatsci.2016.02.001

Nikishina, E. E., Drobot, D. V., & Lebedeva, E. N. (2014). Niobium and tantalum: State of the world market, application fields, and sources of raw materials. Part 2. Russian Journal of Non-Ferrous Metals, 55(2), 130–140. https://doi.org/10.3103/S1067821214020126

Nogueira, J. S. M., Santana, V. T., Henrique, P. V., Aguiar, L. G. de, Silva, J. P. A., Mussatto, S. I.,...
Nowak, I., & Ziolek, M. (1999). Niobium Compounds: Preparation, Characterization, and Application in Heterogeneous Catalysis. Chemical Reviews, 99(12), 3603–3624. https://doi.org/10.1021/cr9800208

Oliveira, L. C. A., Portilho, M. F., Silva, A. C., Taroco, H. A., & Souza, P. P. (2012). Modified niobia as a bifunctional catalyst for simultaneous dehydration and oxidation of glycerol. Applied Catalysis B: Environmental, 117-118, 29–35. https://doi.org/10.1016/j.apcatb.2011.12.043

Raba-Paéz, A. M., Falcony-Guajardo, C., Supelano-García, I., & Joya, M. R. (2020). Niobium Pentoxide Samples with Addition of Manganese at Different Concentrations and Calcination Temperatures Applied in the Photocatalytic Degradation of Rhodamine B. Applied Sciences, 10(12), 4257. https://doi.org/10.3390/app10124257

Rade, L. L., Lemos, C. O. T., Barrozo, M. A. de S., Ribas, R. M., Monteiro, R. de S., & Hori, C. E. (2019). Optimization of esterification reaction over niobium phosphate in a packed bed tubular reactor. Renewable Energy, 131, 348–355. https://doi.org/10.1016/j.renene.2018.07.041

Reguera, F. M., Araujo, L. R. R. de, Picardo, M. C., Bello, F. de O., Scofield, C. F., Pastura, N. M. R., & Gonzalez, W. de A. (2004). The use of niobium based catalysts for liquid fuel production. Materials Research, 7(2), 343–348. https://doi.org/10.1590/s1516-143920040002100021

Rezende, D. B. de, Rocha, M. P. de O., & Pasa, V. M. D. (2019). RE-ESTERIFICATION OF MACAUBA ACID OIL USING GLYCEROL FOR ACIDITY REDUCTION AND BIODIESEL PRODUCTION. Brazilian Journal of Chemical Engineering, 36(3), 1195–1204. https://doi.org/10.1590/0104-6632.20190363s20180591

Rogers, K. A., & Zheng, Y. (2016). Selective Deoxygenation of Biomass-Derived Bio-oils within Hydrogen-Modest Environments: A Review and New Insights. ChemSusChem, 9(4), 1750–1772. https://doi.org/10.1002/cssc.201600144

Scaldaferri, C. A., & Pasa, V. M. D. (2019a). Production of jet fuel and green diesel range biohydrocarbons by hydropyrolysis of soybean oil over niobium phosphate catalyst. Fuel, 245, 458–466. https://doi.org/10.1016/j.fuel.2019.01.179

Scaldaferri, C. A., & Pasa, V. M. D. (2019b). Hydrogen-free process to convert lipids into bio-jet fuel and green diesel over niobium phosphate catalyst in one-step. Chemical Engineering...
Scarsella, M., de Caprariis, B., Damizia, M., & De Filippis, P. (2020). Heterogeneous catalysts for hydrothermal liquefaction of lignocellulosic biomass: A review. *Biomass and Bioenergy, 140*, 105662. https://doi.org/10.1016/j.biombioe.2020.105662

Shao, Y., Xia, Q., Dong, L., Liu, X., Han, X., Parker, S. F., Cheng, Y., Daemen, L. L., Ramirez-Cuesta, A. J., Yang, S., & Wang, Y. (2017). Selective production of arenes via direct lignin upgrading over a niobium-based catalyst. *Nature Communications, 8*(May), 1–9. https://doi.org/10.1038/ncomms16104

Silva, R. R. C. M., Schmal, M., Frety, R., & Dalmon, J. A. (1993). Effect of the support on the fischer–tropsch synthesis with Co/Nb 2 O 5 catalysts. *J. Chem. Soc., Faraday Trans., 89*(21), 3975–3980. https://doi.org/10.1039/FT9938903975

Singh, D., Sharma, D., Soni, S. L., Sharma, S., & Kumari, D. (2019). Chemical compositions, properties, and standards for different generation biodiesels: A review. *Fuel, 253*(May), 60–71. https://doi.org/10.1016/j.fuel.2019.04.174

Sousa, L. F. de, Toniolo, F. S., Landi, S. M., & Schmal, M. (2017). Investigation of structures and metallic environment of the Ni/Nb 2 O 5 by different in situ treatments – Effect on the partial oxidation of methane. *Applied Catalysis A: General, 537*, 105–110. https://doi.org/10.1016/j.apcata.2017.03.015

Teles, C. A., de Souza, P. M., Rabelo-Neto, R. C., Griffin, M. B., Mukarakate, C., Orton, K. A., Resasco, D. E., & Noronha, F. B. (2018). Catalytic upgrading of biomass pyrolysis vapors and model compounds using niobia supported Pd catalyst. *Applied Catalysis B: Environmental, 238*(April), 38–50. https://doi.org/10.1016/j.apcatb.2018.06.073

Tirsoaga, A., Kuncser, V., Parvulescu, V. I., & Coman, S. M. (2021). Niobia-based magnetic nanocomposites: Design and application in direct glucose dehydration to HMF. *Catalysis Today, 366*, 48–56. https://doi.org/10.1016/j.cattod.2020.09.033

Wang, F., Ouyang, D., Zhou, Z., Page, S. J., Liu, D., & Zhao, X. (2021). Lignocellulosic biomass as sustainable feedstock and materials for power generation and energy storage. *Journal of Energy Chemistry, 57*, 247–280. https://doi.org/10.1016/j.jechem.2020.08.060

Wang, P., Jing, Y., Guo, Y., Cui, Y., Dai, S., Liu, X., & Wang, Y. (2020). Highly efficient alloyed NiCu/Nb 2 O 5 catalyst for the hydrodeoxygenation of biofuel precursors into liquid alkanes. *Catalysis Science & Technology, 10*(13), 4256–4263. https://doi.org/10.1039/D0CY00684J

Wasalathanthri, N. D., Guild, C., Nizami, Q. A., Wasalathanthri, N. D., Guild, C., Nizami, Q. A., Disnanayake, S. L., He, J., Kerns, P., Fee, J., Achola, L., Rathnayake, D., Weerakkody, C., Sujid, S. L., & Nandi, P. (2019). Niobium-substituted octahedral molecular sieve (OMS-2) materials in selective oxidation of methanol to dimethoxyethane. *RSC Advances, 9*(56), 32665–32673. https://doi.org/10.1039/C9RA04804A

Wei, W., Yang, H., & Wu, S. (2019). Efficient conversion of carbohydrates into levulinic acid over chromium modified niobia phosphate catalyst. *Fuel, 256*, 115940. https://doi.org/10.1016/j.fuel.2019.115940

Wolski, L. (2020). Factors affecting the activity and selectivity of niobia-based gold catalysts in liquid phase glycerol oxidation. *Catalysis Today, 354*, 36–43. https://doi.org/10.1016/j.cattod.2019.07.015

Xia, Q.-N., Cuan, Q., Liu, X.-H., Gong, X.-Q., Lu, G.-Z., & Wang, Y.-Q. (2014). Pd/NbOPO 4
Multifunctional Catalyst for the Direct Production of Liquid Alkanes from Aldol Adducts of Furans. *Angewandte Chemie International Edition*, 53(37), 9755–9760. https://doi.org/10.1002/anie.201403440

Xia, Q., Xia, Y., Xi, J., Liu, X., Zhang, Y., Guo, Y., & Wang, Y. (2017). Selective One-Pot Production of High-Grade Diesel-Range Alkanes from Furfural and 2-Methylfuran over Pd/NbOPO 4. *ChemSusChem*, 10(4), 747–753. https://doi.org/10.1002/cssc.201601522

Xia, Q., Zhuang, X., Li, M. M.-J., Peng, Y.-K., Liu, G., Wu, T.-S., Soo, Y.-L., Gong, X.-Q., Wang, Y., & Tsang, S. C. E. (2016). Cooperative catalysis for the direct hydrodeoxygenation of vegetable oils into diesel-range alkanes over Pd/NbOPO 4. *Chemical Communications*, 52(29), 5160–5163. https://doi.org/10.1039/C5CC10419J

Zhang, C., Jia, C., Cao, Y., Yao, Y., Xie, S., Zhang, S., & Lin, H. (2019). Water-assisted selective hydrodeoxygenation of phenol to benzene over the Ru composite catalyst in the biphasic process. *Green Chemistry*, 21(7), 1668–1679. https://doi.org/10.1039/C8GC04017F

Zhang, J., Chen, W.-T., Zhang, P., Luo, Z., & Zhang, Y. (2013). Hydrothermal liquefaction of Chlorella pyrenoidosa in sub- and supercritical ethanol with heterogeneous catalysts. *Bioresource Technology*, 133, 389–397. https://doi.org/10.1016/j.biortech.2013.01.076

Zhang, S., Yang, X., Zhang, H., Chu, C., Zheng, K., Ju, M., & Liu, L. (2019). Liquefaction of biomass and upgrading of bio-oil: A review. *Molecules*, 24(12), 1–30. https://doi.org/10.3390/molecules24122250

Zhao, B., Li, H., Wang, H., Hu, Y., Gao, J., Zhao, G., Ray, M. B., & Xu, C. C. (2021). Synergistic effects of metallic Fe and other homogeneous/heterogeneous catalysts in hydrothermal liquefaction of woody biomass. *Renewable Energy*, 176, 543–554. https://doi.org/10.1016/j.renene.2021.05.115

Zhao, H., Hu, X., Hao, J., Li, N., Zhi, K., He, R., Wang, Y., Zhou, H., & Liu, Q. (2020). An efficient bifunctional Ru-NbOPO4 catalyst for the hydrodeoxygenation of aromatic ethers, phenols and real bio-oil. *Applied Catalysis A: General*, 591(December 2019). https://doi.org/10.1016/j.apcata.2019.117378

Ziolek, M. (2003). Niobium-containing catalysts—the state of the art. *Catalysis Today*, 78(1–4), 47–64. https://doi.org/10.1016/S0920-5861(02)00340-1

Zuorro, A., García-Martínez, J. B., & Barajas-Solano, A. F. (2020). The Application of Catalytic Processes on the Production of Algae-Based Biofuels: A Review. *Catalysts*, 11(1), 22. https://doi.org/10.3390/catal11010022